# Mechanical <br> Characterization of Materials and Wave Dispersion 

Edited by
Yvon Chevalier and Jean Vinh Tuong

Mechanics of Viscoelastic Materials and Wave Dispersion

# Mechanics of Viscoelastic Materials and Wave Dispersion 

Edited by<br>Yvon Chevalier<br>Jean Tuong Vinh

(3)WILEY

First published 2010 in Great Britain and the United States by ISTE Ltd and John Wiley \& Sons, Inc.

Apart from any fair dealing for the purposes of research or private study, or criticism or review, as permitted under the Copyright, Designs and Patents Act 1988, this publication may only be reproduced, stored or transmitted, in any form or by any means, with the prior permission in writing of the publishers, or in the case of reprographic reproduction in accordance with the terms and licenses issued by the CLA. Enquiries concerning reproduction outside these terms should be sent to the publishers at the undermentioned address:

| ISTE Ltd | John Wiley \& Sons, Inc. |
| :--- | :--- |
| 27-37 St George's Road | 111 River Street |
| London SW19 4EU | Hoboken, NJ 07030 |
| UK | USA |
| www.iste.co.uk | www.wiley.com |

## © ISTE Ltd 2010

The rights of Yvon Chevalier and Jean Tuong Vinh to be identified as the authors of this work have been asserted by them in accordance with the Copyright, Designs and Patents Act 1988.

Library of Congress Cataloging-in-Publication Data
Chevalier, Yvon.
Mechanics of viscoelastic materials and wave dispersion / Yvon Chevalier, Jean Tuong Vinh. p. cm.

Includes bibliographical references and index.
ISBN 978-1-84821-077-6

1. Viscoelastic materials--Mechanical properties--Mathematical models. 2. Flexible structures--Vibration-Mathematical models. 3. Structural engineering--Materials--Mathematical models. 4. Wave motion, Theory of--Mathematics. 5. Dispersion--Mathematical models. 6. Wave equation. I. Tuong, Jean Vinh. II. Title.
TA418.2.C466 2010
620.1'1232--dc22

British Library Cataloguing-in-Publication Data
A CIP record for this book is available from the British Library
ISBN 978-1-84821-077-6

Printed and bound in Great Britain by CPI Antony Rowe, Chippenham and Eastbourne
$\sqrt{3}$
FSC
Mixed Sources
Product troup from well-managed
forests and other controlece sources
Cert no. SG5-COC-295
www.fsc.org

## Table of Contents

Preface ..... xix
Acknowledgements ..... xxix
Part A. Constitutive Equations Of Materials ..... 1
Chapter 1. Elements of Anisotropic Elasticity and Complements on Previsional Calculations ..... 3
Yvon Chevalier
1.1. Constitutive equations in a linear elastic regime ..... 4
1.1.1. Symmetry applied to tensors $\mathrm{s}_{\mathrm{ijk} 1}$ and $\mathrm{c}_{\mathrm{ijk} 1}$ ..... 4
1.1.2. Constitutive equations under matrix form ..... 5
1.2. Technical elastic moduli ..... 7
1.2.1. Tension tests with one normal stress component $\sigma$ ..... 7
1.2.2. Shear test ..... 9
1.3. Real materials with special symmetries ..... 10
1.3.1. Change of reference axes ..... 11
1.3.2. Orthotropic materials possess two orthogonal planes of symmetry ..... 16
1.3.3. Quasi-isotropic transverse (tetragonal) material ..... 19
1.3.4. Transverse isotropic materials (hexagonal system) ..... 20
1.3.5. Quasi-isotropic material (cubic system) ..... 21
1.3.6. Isotropic materials ..... 22
1.4. Relationship between compliance $\mathrm{S}_{\mathrm{ij}}$ and stiffness $\mathrm{C}_{\mathrm{ij}}$ for orthotropic materials ..... 23
1.5. Useful inequalities between elastic moduli ..... 24
1.5.1. Orthotropic materials ..... 25
1.5.2. Quasi transverse isotropic materials ..... 26
1.5.3. Transverse isotropic, quasi-isotropic, and isotropic materials ..... 26
1.6. Transformation of reference axes is necessary in many circumstances ..... 27
1.6.1. Practical examples ..... 27
1.6.2. Components of stiffness and compliance after transformation ..... 27
1.6.3. Remarks on shear elastic moduli $\mathrm{G}_{\mathrm{ii}}(\mathrm{ij}=23,31,12)$ and stiffness constants $\mathrm{C}_{\mathrm{ii}}$ (with $\mathrm{i}=4,5,6$ ) ..... 28
1.6.4. The practical consequence of a transformation of reference axes ..... 28
1.7. Invariants and their applications in the evaluation of elastic constants ..... 28
1.7.1. Elastic constants versus invariants ..... 32
1.7.2. Practical utilization of invariants in the evaluation of elastic constants ..... 35
1.8. Plane elasticity ..... 35
1.8.1. Expression of plane stress stiffness versus compliance matrix ..... 35
1.8.2. Plane stress stiffness components versus three-dimensional stiffness components ..... 38
1.9. Elastic previsional calculations for anisotropic composite materials ..... 38
1.9.1. Long fibers regularly distributed in the matrix ..... 39
1.9.2. Stratified composite materials ..... 44
1.9.3. Reinforced fabric composite materials ..... 46
1.10. Bibliography ..... 51
1.11. Appendix ..... 52
Appendix 1.A. Overview on methods used in previsional calculation of fiber-reinforced composite materials. ..... 52
Chapter 2. Elements of Linear Viscoelasticity ..... 57
Yvon Chevalier
2.1. Time delay between sinusoidal stress and strain ..... 59
2.2. Creep and relaxation tests ..... 60
2.2.1. Creep test. ..... 60
2.2.2. Relaxation test. ..... 61
2.2.3. Ageing and non-ageing viscoelastic materials ..... 62
2.2.4. Viscoelastic materials with fading memory ..... 63
2.3. Mathematical formulation of linear viscoelasticity ..... 63
2.3.1. Linear system ..... 63
2.3.2. Superposition (or Boltzmann's) principle. ..... 64
2.3.3. Creep function in a functional constitutive equation ..... 67
2.3.4. Relaxation function in functional constitutive equations ..... 68
2.3.5. Properties of relaxation and creep functions ..... 68
2.4. Generalization of creep and relaxation functions to tridimensional constitutive equations ..... 71
2.4.1. Relaxation function as components in a stiffness matrix ..... 71
2.4.2. Creep function as components in a compliance matrix ..... 73
2.4.3. Some remarks on the mathematical formulation of linear viscoelatic behavior of materials ..... 74
2.5. Principle of correspondence and Carson-Laplace transform for transient viscoelastic problems ..... 74
2.5.1. Carson-Laplace's transform ..... 76
2.5.2. Complex moduli ..... 78
2.5.3. Properties of the complex relaxation and creep components matrix versus circular frequency ..... 80
2.6. Correspondence principle and the solution of the harmonic viscoelastic system ..... 82
2.7. Inter-relationship between harmonic and transient regimes ..... 83
2.8. Modeling of creep and relaxation functions: example ..... 87
2.8.1. Basic rheological cells ..... 88
2.8.2. General parametric modeling ..... 89
2.8.3. Modeling with three rheological parameters: examples ..... 93
2.8.4. Modeling with four rheological parameters: fractional derivative ..... 98
2.9. Conclusion ..... 100
2.10. Bibliography ..... 100
Chapter 3. Two Useful Topics in Applied Viscoelasticity: Constitutive Equations for Viscoelastic Materials ..... 103
Yvon Chevalier and Jean Tuong Vinh
3.1. Williams-Landel-Ferry's method ..... 104
3.1.1. The effect of temperature change ..... 104
3.1.2. Williams-Landel-Ferry's formulation ..... 105
3.1.3. Experimental procedure to obtain the master curve ..... 107
3.1.4. Examples of master curves ..... 108
3.1.5. Applicability of the method of reduced variables ..... 109
3.1.6. Utilization of another representation of complex moduli (or compliances) ..... 111
3.1.7. Extension of Williams-Landel-Ferry's methods to composite materials ..... 112
3.2. Viscoelastic time function obtained directly from a closed-form expression of complex modulus or complex compliance ..... 112
3.2.1. Overview of state-of-the-art in viscoelasticity and structural dynamics. ..... 112
3.2.2. Polynomial functions of frequency used to express complex moduli ..... 116
3.2.3. Fractional derivatives ..... 124
3.2.4. Use of inverse Carson-Laplace transform to obtain a closed-form expression of transient response ..... 130
3.2.5. Applications ..... 133
3.3. Concluding remarks ..... 136
3.3.1. Williams-Landel-Ferry's method ..... 136
3.3.2. Polynomial quotient and fractional derivatives are used to mathematically express the dynamic response of viscoelastic materials ..... 136
3.4. Bibliography ..... 137
3.5. Appendices ..... 139
Appendix 3.A. Inversion of Laplace transform ..... 139
Appendix 3.B. Sutton's method for long time response ..... 143
Chapter 4. Formulation of Equations of Motion and Overview of their Solutions by Various Methods ..... 145
Jean Tuong VinH
4.1. D'Alembert's principle ..... 146
4.1.1. Generalized coordinates ..... 146
4.1.2. Principle of virtual work ..... 147
4.1.3. Equation of motion by D'Alembert's principle ..... 148
4.2. Lagrange's equation ..... 149
4.2.1. System subjected to $r$ holonomic geometric constraints ..... 149
4.2.2. Generalized forces ..... 151
4.2.3. Introduction to kinetic energy ..... 151
4.2.4. Lagrange's equation ..... 152
4.2.5. Potential function ..... 154
4.2.6. Lagrangian function with Rayleigh dissipation function ..... 155
4.3. Hamilton's principle ..... 157
4.4. Practical considerations concerning the choice of equations of motion and related solutions ..... 159
4.4.1. Boundary conditions and approximate equations of motion. ..... 160
4.4.2. Choice of equations of motion ..... 160
4.4.3. The degree of approximation ..... 161
4.5. Three-, two- or one-dimensional equations of motion? ..... 162
4.5.1. Three-dimensional equations of motion ..... 162
4.5.2. Two- or one-dimensional equations of motion. ..... 163
4.5.3. Wave dispersion ..... 163
4.6. Closed-form solutions to equations of motion ..... 163
4.6.1. Degree of differential equations of six or less ..... 163
4.6.2. Degree of differential equations exceeding six ..... 163
4.7. Bibliography ..... 164
4.8. Appendices ..... 165
Appendix 4.A. Equations of motion in elastic medium deduced from Love's variational principle. ..... 165
Appendix 4.B. Lagrange's equations of motion deduced from Hamilton's principle ..... 167
Part B. Rod Vibrations ..... 173
Chapter 5. Torsional Vibration of Rods ..... 175
Yvon Chevalier, Michel Nugues and James Onobiono
5.1. Introduction ..... 175
5.1.1. Short bibliography of the torsion problem ..... 176
5.1.2. Survey of solving methods for torsion problems ..... 176
5.1.3. Extension of equations of motion to a larger frequency range ..... 179
5.2. Static torsion of an anisotropic beam with rectangular section without bending - Saint Venant, Lekhnitskii's formulation ..... 180
5.2.1. Airy's function and field of displacement $\psi$ ..... 181
5.2.2. Solution of equation [5.10] with Airy's function ..... 184
5.2.3. Expressions of torsion moment $\mathrm{M}_{\mathrm{t}}$ versus torsion angle $\alpha$ and stiffness $\mathrm{C}_{\mathrm{T}}$ ..... 186
5.2.4. Approximate formulae for $\mathrm{M}_{\mathrm{T}}$ and $\mathrm{C}_{\mathrm{T}}$ ..... 189
5.2.5. Dynamic torsion of a rod with rectangular section using the elementary equation of motion ..... 189
5.2.6. Pure dynamic torsion of a rod with rectangular cross-section using first-degree approximation ..... 194
5.3. Torsional vibration of a rod with finite length ..... 199
5.3.1. Closed-form solution of $\theta(\mathrm{z}, \mathrm{t})$. ..... 200
5.3.2. Evaluation of spatial solution $\Theta(z)$ ..... 202
5.3.3. Evaluation of coefficients $\theta(\mathrm{z}, \mathrm{t})$ and $\zeta(\mathrm{z}, \mathrm{t})$. ..... 203
5.4. Simplified boundary conditions associated with higher approximation equations of motion [5.49]. ..... 204
5.5. Higher approximation equations of motion ..... 205
5.5.1. Slenderness ..... 205
5.5.2. Ratio $\mathrm{E} / \mathrm{G}_{\mathrm{ij}}$ ..... 205
5.5.3. Flatness ratio $\mathrm{s}=$ width/thickness $=\mathrm{b} / \mathrm{h}$ ..... 207
5.5.4. Saint Venant's theory versus higher approximation theory ..... 207
5.6. Extension of Engström's theory to the anisotropic theory of dynamic torsion of a rod with rectangular cross-section ..... 207
5.7. Equations of motion ..... 212
5.7.1. Matricial form ..... 212
5.7.2. Decoupled equation of motion and correcting coefficient ..... 214
5.8. Torsion wave dispersion ..... 215
5.8.1. Expressions of angular displacement $\alpha(z, t)$ and axial displacement $\psi(z, t)$ ..... 215
5.8.2. Phase velocity for the two first elastodynamic modes ..... 217
5.9. Presentation of dispersion curves ..... 219
5.9.1. Isotropic rod with circular section ..... 219
5.9.2. Isotropic steel rod with rectangular section ..... 219
5.9.3. Anisotropic composite rods ..... 219
5.9.4. Some remarks ..... 223
5.9.5. Practical remark ..... 225
5.9.6. Comparison with other theories (Barr and Engström) ..... 225
5.10. Torsion vibrations of an off-axis anisotropic rod ..... 225
5.10.1. Displacement field ..... 226
5.10.2. Equations of motion ..... 229
5.10.3. Eigenfrequency equations of motion. ..... 229
5.10.4. Solutions of decoupled equations. ..... 233
5.10.5. For a very long rod ..... 234
5.11. Dispersion of deviated torsional waves in off-axis anisotropic rods with rectangular cross-section ..... 235
5.12. Dispersion curve of torsional phase velocities of an off-axis anisotropic rod. ..... 240
5.13. Concluding remarks ..... 241
5.13.1. Characterization of shear moduli and non-diagonal coefficients of a compliance matrix ..... 241
5.13.2. Dispersion of torsional phase velocity ..... 241
5.13.3. Saint Venant's warping theory ..... 241
5.13.4. A more elaborate warping theory. ..... 242
5.13.5. Dispersion of torsional phase velocity. ..... 242
5.13.6. Nugue's theory ..... 242
5.13.7. Dispersion of phase and group velocities ..... 242
5.14. Bibliography ..... 242
5.15. Table of symbols ..... 244
5.16. Appendices ..... 246
Appendix 5.A. Approximate formulae for torsion stiffness ..... 246
Appendix 5.B. Equations of torsional motion obtained from Hamilton's variational principle ..... 250
Appendix 5.C. Extension of Barr's correcting coefficient in equations of motion ..... 257
Appendix 5.D. Details on coefficient calculations for $\theta(z, t)$ and $\zeta(z, t)$ ..... 258
Appendix 5.E. A simpler solution to the problem analyzed in Appendix 5.D ..... 263
Appendix 5.F. Onobiono's and Zienkievics' solutions using finite element method for warping function $\phi$ ..... 265
Appendix 5.G. Formulation of equations of motion for an off-axisanisotropic rod submitted to coupled torsion and bending vibrations273
Appendix 5.H. Relative group velocity versus relative wave number ..... 279
Chapter 6. Bending Vibration of a Rod ..... 291
Dominique LE NIZHERY
6.1. Introduction ..... 291
6.1.1. Short bibliography of dynamic bending of a beam ..... 292
6.2. Bending vibration of straight beam by elementary theory ..... 293
6.2.1. Bernoulli-Euler's equation of motion ..... 293
6.2.2. Solutions of Bernoulli-Euler's equations ..... 296
6.3. Higher approximation theory of bending vibration ..... 299
6.3.1. Formulation of the equations of motion ..... 299
6.3.2. Coupled equations of motion ..... 302
6.3.3. Decoupled equation of motion ..... 303
6.3.4. Solution to the practical problem ..... 305
6.3.5. Stationary bending vibration ..... 305
6.3.6. Non-dimensional equation of motion ..... 305
6.3.7. Equation of motion with reduced variables. ..... 306
6.3.8. Expression of flexural displacement and shear $\varphi$ ..... 307
6.3.9. Coefficient calculations ..... 308
6.3.10. Evaluation of Young's modulus by solution of Timoshenko's equation ..... 309
6.3.11. Dispersion curves related to various theories of bending waves in a rod ..... 311
6.3.12. Influence of rotational inertia and transverse shear ..... 312
6.4. Bending vibration of an off-axis anisotropic rod ..... 313
6.4.1. Preliminary considerations ..... 313
6.4.2. Flexural vibration of an off-axis rod. ..... 313
6.4.3. Equations of motion ..... 314
6.4.4. Reduced variables and characteristic frequency equations for stationary waves ..... 317
6.4.5. Computer program using trial and error method to evaluate Poisson's number. ..... 324
6.5. Concluding remarks ..... 324
6.5.1. Choice of equations of motion ..... 324
6.5.2. Test sample slenderness and influence of shear effect ..... 325
6.5.3. Strong influence of shear effect for composite materials: accuracy of Young's modulus and non-diagonal technical modulus evaluation. ..... 326
6.5.4. Comments on computational effort to evaluate Young's modulus for off-axis samples ..... 326
6.6. Bibliography ..... 326
6.7. Table of symbols ..... 327
6.8. Appendices ..... 328
Appendix 6.A. Timoshenko's correcting coefficients for anisotropic and isotropic materials ..... 328
Appendix 6.B. Correcting coefficient using Mindlin's method. ..... 333
Appendix 6.C. Dispersion curves for various equations of motion. ..... 334
Appendix 6.D. Change of reference axes and elastic coefficients for an anisotropic rod ..... 337
Chapter 7. Longitudinal Vibration of a Rod ..... 339
Yvon Chevalier and Maurice Touratier
7.1. Presentation ..... 339
7.1.1. Elementary equation of motion ..... 340
7.1.2. Boundary conditions ..... 342
7.2. Bishop's equations of motion ..... 343
7.2.1. Isotropic material ..... 343
7.2.2. Transversely isotropic material ..... 343
7.2.3. Longitudinal wave dispersion. ..... 344
7.3. Improved Bishop's equation of motion ..... 345
7.4. Bishop's equation for orthotropic materials ..... 346
7.5. Eigenfrequency equations for a free-free rod ..... 346
7.5.1. Harmonic solution for dimensionless Bishop's equation ..... 346
7.5.2. Boundary conditions and eigenvalue equations ..... 348
7.6. Touratier's equations of motion of longitudinal waves ..... 350
7.6.1. General considerations ..... 350
7.6.2. Dispersion curves according to various theories ..... 350
7.6.3. Displacement field and boundary conditions ..... 353
7.6.4. Strain and stress components ..... 357
7.6.5. Energy functionals and Hamilton's principle ..... 361
7.6.6. Equations of motion ..... 366
7.6.7. Boundary equations ..... 367
7.7. Wave dispersion relationships ..... 367
7.7.1. Phase velocity in composite materials ..... 369
7.7.2. Extensional waves in an anisotropic composite rod with rectangular cross-section - dispersion curves ..... 372
7.7.3. Natural boundary conditions ..... 385
7.7.4. Various types of solutions for the equations of motion ..... 386
7.8. Short rod and boundary conditions ..... 393
7.8.1. Elementary theory ..... 393
7.8.2. Boundary conditions ..... 394
7.9. Concluding remarks about Touratier's theory ..... 395
7.10. Bibliography ..... 396
7.11. List of symbols ..... 397
7.12. Appendices ..... 399
Appendix 7.A. an outline of some studies on longitudinal vibration of rods with rectangular cross-section ..... 399
Appendix 7.B. Formulation of Bishop's equation by Hamilton's principle by Rao and Rao ..... 401
Appendix 7.C. Dimensionless Bishop's equations of motion and dimensionless boundary conditions ..... 405
Appendix 7.D. Touratier's equations of motion by variational calculus ..... 408
Appendix 7.E. Calculation of correcting factor $\mathrm{q}\left(\mathrm{C}_{\mathrm{ijkl}}\right)$ ..... 409
Appendix 7.F. Stationarity of functional $\tilde{\mathrm{J}}$ and boundary equations ..... 419
Appendix 7.G. On the possible solutions of eigenvalue equations ..... 419
Chapter 8. Very Low Frequency Vibration of a Rod by Le Rolland-Sorin's Double Pendulum ..... 425
Mostefa ARCHI and Jean-Baptiste CASIMIR
8.1. Introduction. ..... 425
8.1.1. Frequency range ..... 425
8.1.2. Simplicity and ease ..... 426
8.2. Short bibliography ..... 427
8.3. Flexural vibrations of a rod using coupled pendulums ..... 427
8.3.1. Lagrange equations of motion ..... 428
8.3.2. Eigenvalue equation ..... 430
8.3.3. Solutions for pendulum oscillations ..... 431
8.3.4. Relationship between beating period and sample stiffness k ..... 431
8.4. Torsional vibration of a beam by double pendulum ..... 434
8.4.1. Equations of torsional motions ..... 434
8.5. Complex compliance coefficient of viscoelastic materials ..... 436
8.5.1. General consideration ..... 436
8.5.2. Expression of $\left(\omega_{1}-\omega_{2}\right)$ ..... 439
8.5.3. Utilization of correspondence principle to obtain complex sample rigidity ..... 441
8.6. Elastic stiffness of an off-axis rod ..... 443
8.6.1. Elementary equations of motion ..... 444
8.6.2. Higher approximation equations of motion. ..... 448
8.7. Bibliography ..... 449
8.8. List of symbols ..... 450
8.9. Appendices ..... 452
Appendix 8.A. Closed-form expression of $\theta_{1}$ or $\theta_{2}$ oscillation angles of the pendulums and practical considerations ..... 452
Appendix 8.B. Influence of the highest eigenfrequency $\omega_{3}$ on the pendulum oscillations in the expression of $\theta_{1}(\mathrm{t})$ ..... 457
Appendix 8.C. Coefficients a of compliance matrix after a change of axes for transverse isotropic material ..... 458
Appendix 8.D. Mathematical formulation of the simultaneous bending and torsion of an off-axis rectangular rod ..... 460
Appendix 8.E. Details on calculations of $\mathrm{s}_{35}$ and $v_{13}$ of transverse isotropic materials ..... 486
Chapter 9. Vibrations of a Ring and Hollow Cylinder ..... 493
Jean Tuong VinH
9.1. Introduction ..... 493
9.2. Equations of motion of a circular ring with rectangular cross-section ..... 494
9.2.1. Generalized displacement and force ..... 494
9.2.2. Bending equations ..... 495
9.2.3. Strain components ..... 496
9.2.4. Force components ..... 497
9.2.5. Equations of motion ..... 498
9.2.6. Eigenvalue equations ..... 498
9.2.7. Solution of characteristics equation ..... 499
9.2.8. Equations of motion of the ring submitted to in plane forced vibrations ..... 500
9.2.9. Expression of Young's modulus versus Q ..... 501
9.3. Bibliography ..... 502
9.4. Appendices ..... 503
Appendix 9.A. Expression u( $\theta$ ) in the three subintervals delimited by the roots $\lambda$ of equation [9.33] ..... 503
Chapter 10. Characterization of Isotropic and Anisotropic Materials by Progressive Ultrasonic Waves ..... 513
Patrick GARCEAU
10.1. Presentation of the method ..... 513
10.1.1. Use of ultrasonic waves ..... 513
10.1.2. Practical considerations of ultrasonic waves ..... 514
10.2. Propagation of elastic waves in an infinite medium ..... 515
10.3. Progressive plane waves ..... 516
10.3.1. Christoffel tensor ..... 517
10.3.2. Christoffel's equation. ..... 517
10.3.3. Eigenvalues of $\Gamma_{\mathrm{ik}}$ are real ..... 518
10.3.4. Eigenvectors of $\Gamma_{\mathrm{ik}}$ are mutually orthogonal ..... 518
10.4. Polarization of three kinds of waves ..... 518
10.4.1. Longitudinal wave ..... 518
10.4.2. Transverse or shear wave ..... 518
10.4.3. Quasi transverse (QT) wave . ..... 519
10.5. Propagation in privileged directions and phase velocity calculations ..... 519
10.5.1. Wave propagation along material symmetry axes ..... 520
10.5.2. Elastic constants obtained with $\vec{p}$ colinear with one of the three material directions of symmetry ..... 525
10.5.3. Wave propagation along a non-privileged direction. ..... 525
10.6. Slowness surface and wave propagation through a separation surface ..... 528
10.6.1. Slowness surface representation ..... 529
10.6.2. Slowness surfaces for transverse isotropic composite material ..... 533
10.7. Propagation of an elastic wave through an anisotropic blade with two parallel faces ..... 535
10.7.1. Direct transducer couplings with sample ..... 536
10.7.2. Water immersion bench ..... 537
10.8. Concluding remarks ..... 542
10.9. Bibliography ..... 543
10.10. List of Symbols ..... 544
10.11. Appendices ..... 546
Appendix 10.A. Energy velocity, group velocity, Poynting vector ..... 546
Appendix 10.B. Slowness surface and energy velocity ..... 553
Chapter 11. Viscoelastic Moduli of Materials Deduced from Harmonic
Responses of Beams ..... 555
Tibi Beda, Christine Esteoule, Mohamed Soula and Jean Tuong Vinh
11.1. Introduction ..... 555
11.1.1. Trial and error method ..... 555
11.1.2. Are wave dispersion phenomena to be taken into account or not? ..... 556
11.1.3. Williams-Landel-Ferry's method ..... 556
11.1.4. Validity of elementary equations of motion ..... 556
11.1.5. Choice of equations of motion without recourse to
Williams-Landel-Ferry's method ..... 556
11.2. Guidelines for practicians ..... 557
11.2.1. Viscoelastic complex moduli and frequency range ..... 557
11.3. Solution of a viscoelastic problem using the principle of correspondence ..... 558
11.3.1. First step: elastic solution ..... 559
11.3.2. Second step: estimation of dispersion curves. ..... 560
11.3.3. Searching for a solution to viscoelastic moduli using characteristic functions ..... 561
11.4. Viscoelastic solution of equation of motions ..... 564
11.4.1. Experimental dynamic responses must be available. ..... 564
11.4.2. Elementary equations of motion and closed-form expression for the transmissibility function for an extensional wave ..... 566
11.4.3. Torsional vibration of a viscoelastic rod. ..... 572
11.4.4. Bending vibration of a viscoelastic rod ..... 575
11.5. Viscoelastic moduli using equations of higher approximation degree. ..... 579
11.5.1. Inertia and shear effects ..... 580
11.5.2. Torsional vibration ..... 581
11.5.3. Bending vibration of a rod (higher order approximation). ..... 582
11.6. Bibliography ..... 588
11.7. Appendices ..... 589
Appendix 11.A. Transmissibility function of a rod submitted to longitudinal vibration (elementary equation of motion) ..... 589
Appendix 11.B. Newton-Raphson's method applied to a couple of functions of two real variables $\beta_{1}$ and $\beta_{2}$ components of $\beta$. ..... 590
Appendix 11.C. Transmissibility function of a clamped-free Bernoulli's rod submitted to bending vibration ..... 591
Appendix 11.D. Complex transmissibility function of a clamped-free Bernoulli's rod and its decomposition into two functions of real variables $\beta_{1}, \beta_{2}$. ..... 593
Appendix 11.E. Eigenvalue equation of clamped-free Timoshenko's rod ..... 594
Appendix 11.F. Transmissibility function of clamped-free Timoshenko's rod ..... 595
Chapter 12. Continuous Element Method Utilized as a Solution to Inverse Problems in Elasticity and Viscoelasticity ..... 599
Jean-Baptiste CASIMIR
12.1. Introduction ..... 599
12.2. Overview of the continuous element method ..... 601
12.2.1. Equilibrium equations and the force-displacement relationship ..... 601
12.2.2. Explicit continuous element ..... 603
12.2.3. State vector and dynamic transfer matrix ..... 605
12.2.4. Transfer matrix and dynamic stiffness presented in suitable form for matrix calculation ..... 606
12.2.5. Eigenvalues and eigenvectors of dynamic stiffness ..... 607
12.3. Boundary conditions and their implications in the transfer matrix ..... 608
12.4. Extensional vibration of straight beams (elementary theory) ..... 609
12.5. The direct problem of beams submitted to bending vibration. ..... 612
12.5.1. Euler-Bernoulli's transfer matrix and dynamic stiffness matrix ..... 612
12.5.2. Numerical simulation for a free-free Bernoulli's rod ..... 614
12.5.3. Bending vibration of a free-free Timoshenko's beam ..... 614
12.5.4. Dynamic transfer matrix for Timoshenko's beam ..... 616
12.6. Successive calculation steps to obtain a transfer matrix and simple displacement transfer function ..... 620
12.6.1. Eigenvalue calculations ..... 620
12.6.2. Eigenvector calculation of [D $\omega$ ] ..... 622
12.7. Continuous element method adapted for solving an inverse problem in elasticity and viscoelasticity ..... 622
12.8. Bibliography ..... 624
12.9. Appendices ..... 624
Appendix 12.A. Wavenumbers $\beta_{1}, \beta_{2}$ deduced from Timoshenko's equation ..... 624
List of Authors ..... 629
Index ..... 631

## Preface

The mechanical testing of material is an important activity in research and industry. Scientists, engineers and technicians in a large range of domains (such as chemistry, metallurgy, mechanics, physics, polymer science, the rubber industry, aerospace and aeronautical industries, etc.) are interested in the technology used to investigate the mechanical properties of materials.

Static and dynamic tests are complementary and used concurrently. Static tests are often used in industry. Dynamic tests, however, are becoming more popular and, surprisingly, in many cases are easier to use than static ones, at least at lower frequencies. Let us take an example concerning the measurement of elastic Young's modulus or the shear modulus of a steel rod. In (nearly) static tests, glued strain gauges or special micro-displacement transducers are used to measure, the displacement of the sample in two or three directions at once, which enable us to evaluate the strains. With the measurement of applied force or torque, these two moduli are deduced from the basic definitions relating to stress and strain. There are a succession of measurements and calculations from the stress versus strain curves.

To obtain such elastic moduli using dynamic tests, evaluation of resonance frequencies only is required; dimensions and geometry of the sample and its weight, as well as boundary conditions, being known.

The main interest in dynamic testing, however, resides in characterization of the viscoelastic properties of materials, i.e. the dependency of technical moduli (or relaxation, creep functions) versus the frequency (or time).

## Growing interest in dynamic tests

In industrially advanced countries, societies for material testing regularly publish recommendations concerning mechanical tests with indications on methods and test procedures. Over the last five decades, the methods of investigating dynamic mechanical properties have made significant progress. In the scientific and technical literature devoted to this problem, various viewpoints have been adopted. For example, the dynamic tests that interpret materials at a molecular level, i.e. structural factors, molecular weight, cross-linking, crystallinity, etc., constitute tools in the chemistry and physics of polymers. The science of rheology is being more frequently adopted in order to obtain technical moduli (or time functions) which serve in viscoelastic constitutive equations relating stress components to strain components.

Composite materials cover a large domain including laminated plastics and panels for the building industry. Special composite materials were initially designed and fabricated for advanced applications in the aeronautical and aerospace industries in the 1970s. The anisotropic properties of such materials are obtained by the appropriate arrangement of high-strength fibers in metallic or non-metallic matrices of the layers or by the orientation of the layers in the structural composite. The mechanical characterization of such anisotropic materials consequently requires special testing procedures which are more elaborate than the ones devoted to isotropic materials.

Characterization of metallic and non-metallic material damping capacities is of interest to specialists in chemistry and physics as well as in mechanics.

## Measuring damping

The measurement of damping coefficients of mechanical structures gives rise to a large variety of methods in structural dynamics that deserve the attention of specialists in material testing. The transposition of those methods into rheology, however, requires some caution and adaptations. The damping of a mechanical structure depends on damping of the materials used in the structure and the geometry of the structure itself. Consequently it is necessary to have this distinction in mind. Material damping can be deduced from structural damping on the condition that the relationship between these two kinds of damping is known.

Damping capacities of materials cover a much larger range than structural damping. Globally, damping capacities of materials (defined as the quotient of the imaginary to real part of a complex modulus) can be divided into three classes:
a) low damping $-\tan \delta<10^{-3}$;
b) medium damping $-10^{-3}<\tan \delta<5.10^{-2}$;
c) high damping $-5.10^{-2}<\tan \delta<10$.

Mechanical structural damping, in the majority of cases, concerns class (b) and no caution concerning measurement technique is needed. Class (a) concerns steel or special metals and requires special caution when taking measurements in order to eliminate the predominant influence of air damping on the sample. Class (c) concerns some rubbers or special blends of polymers and metal powders. The usual methods adopted in structural dynamics require special adaptations.

## Size and shape of the sample

In many circumstances, analysts have to deal with samples with special or unusual shapes and sizes. The sample cut off from a hollow cylinder is curved and necessitates a special sample holder. The sample can be very small and therefore commercially available apparatus cannot be used. This is the case in biomechanics, for example, where the sample is a cut-off from a small bone. Analysts then have to come up with and devise a special set up.

## Appropriate knowledge on the elastodynamics of bounded media

Let us begin with some remarks about currently available instruments. In some apparatuses, the mechanical part and adopted loading system are designed in such a way that vibrations imposed on the sample are far from simple. It eventually gives rise to different kinds of vibrations (extensional, bending, torsion) which are coupled in the sample itself. Coupling of such vibrations is often neglected in proposed formulae giving the moduli. The last formulae are deduced from the elementary theory of vibration using localized mechanical parameters that are not necessarily valid for short and thick samples. Mechanical effects (such as shear and inertia effects) are not taken into account. When experiments are conducted in higher frequency ranges, wave dispersion phenomenon (which describes the variation of the wave velocity in the sample versus the frequency) is rarely taken into account.

Attachment of the sample by clamping, gluing or screw tightening creates zones where there is a three-dimensional state of stress that can be localized in the sample submitted to compression forces and also beyond the contact zone between the sample and holder system. This effect is particularly pronounced for a short sample.

These remarks, among others, show that confidence granted to an apparatus must not exclude critical thought and a mechanical background.

## The book

I will now present and comment on the chapters in this book.
The authors have intentionally situated dynamic testing of materials in the context of bounded medium elastodynamics. The measurements of dynamic responses of the sample in a large range of frequencies are interesting for analysts who want to obtain viscoelastic complex moduli. Rheologists ${ }^{1}$ are interested in the relationship between various resonance peaks of dynamic responses versus frequency and micromechanisms of the polymer being tested. Mechanical engineers wish to obtain the curves of complex moduli at low and high frequencies so as to include them in calculation of the dynamic responses of the mechanical structure.

The motion equations of the sample must be carefully chosen, taking into account the frequency range. The upper frequency guides the choice of degree of approximation, which is related to the set of motion equations in view of wave dispersion characterization at the chosen upper frequency range. Wave dispersion is not the only effect we need to account for. There is another dispersion phenomenon: the viscoelastic dispersion, which is also frequency dependent.

These two effects sometimes act in the same sense with respect to frequency, and vice versa regarding sample responses, depending on the type of stationary wave in the sample and the working frequency. This is the reason main wave dispersion should be taken into account and raises the delicate problem of reasoned choice of appropriate equations of motion, compatible with tractable numerical exploitation of experimental results.

Recently, specialists in structural computing science have focused on the continuous element method which permits structure calculation even in the ultrasonic frequency range. This method presents advantages and constitutes a serious competitor for classical finite element method. The elastodynamics of bounded media precisely furnishes theoretical foundations, particularly in the domain of wave dispersion. Consequently, this last topic is treated in detail for various wave types adopted in samples.

[^0]One of the new methods of treating viscoelastic material characterization is to use continuous elements as a tool to numerically solve an inverse problem without recourse to closed-form eigenvalue solutions of boundary equations.

We try to bridge the gap between theoretical academic works on wave dispersion and practical applications that do not yet sufficiently exploit the literature. Many significant theoretical contributions concerning wave dispersion in bounded media during the last three decades merit being brought together, classified and examined in view of applications.

Part $A$ is devoted to continuum mechanics (constitutive equations of materials including anisotropic materials). Chapter 1 covers linear and applied viscoelasticity. Chapter 2 looks at the principle of correspondence that permits the conversion of elastic equations of motion into viscoelastic ones, with the condition that boundary conditions and sample geometry remain the same.

Chapter 3 is devoted to Williams-Landel-Ferry's (WLF) method, which is very popular in the field of polymer chemistry and deserves the attention of mechanical engineers. It permits artificial enlargement of the modulus (or compliance) curve in an unusually large frequency range (often more than eight decades) on the condition that the superposition principle temperature-frequency is applicable.

Serious limitations of WLF's method must be taken into account when dealing with anisotropic artificial composite materials. The superposition principle may not be valid for such materials. The remaining possibility is to directly evaluate complex modulus (or compliance) over a large frequency range. This is the main reason to resort to appropriate wave dispersion theories for these materials.

The closed-form expression of viscoelastic modulus (or compliance) is often necessary in computer codes to evaluate the damping responses of structures. Examining this problem from a practical point of view, we notice that analog models, usually proposed in textbooks and publications, with a reduced number of springs and dashpots cleverly arranged in series and/or in parallel, indeed help the reader "visualize" the material.

For a given experimental dynamic curve, however, we do not know in advance how many associated mechanical elements (springs and dashpots) will be adopted, particularly when the frequency range is large. The appropriate model is often more complicated than the simple academic models indicated above. This unknown model
belongs to the "black box" constituted by the material in the usual mechanical inverse problem to be solved! ${ }^{2}$

Some methods are then proposed to obtain a closed-form expression of modulus (or compliance) versus frequency by quotient of polynomials of the same degree (without a priori assumption of its degree) or by fractional derivatives whose interest resides in the condensed mathematical expression.

In Chapter 4, various formulations of equations of motion are presented. As we have to deal with bounded medium and finite sample length, no exact equations are available: approximate equations of motion are to be found. The main question is: what is the degree of approximation we must adopt? This question raises a subsidiary question: how many generalized displacement components and generalized force components are to be adopted to fully cover the mechanical behavior of the sample?

All the methods presented in dynamics textbooks can be utilized. D'Alembert's principle and Lagrange's equations constitute the first group of methods. The second group includes Hamilton's variational principle using simple displacement field. Love's variational principle can be considered as derived from Hamilton's one. ${ }^{3}$ Mixed field Reissner's principle is, in some cases, useful for correctly portraying the dispersion curve of the sample. This variational method is referred to in an accurate analysis of vibrations of an anisotropic rod.

Part $B$ concerns various types of rod vibration: extension, bending and torsion. Vibration modes are a source of vocabulary confusion for analysts. Let us clarify some different definitions.

Vibration modes might concern the nature of the vibration as mentioned above. The nature of the vibration is related to the predominant strain in the sample, i.e. the extensional strain along the rod axis in longitudinal motion, shear strain in rod torsion, and axial strain in bending test.

[^1]In structural dynamics, vibration mode is related to eigenfrequencies and eigenvectors, which are portrayed by nodal lines on the sample surface whose density increases with frequency.

Elastodynamic vocabulary: attention is focused not only on the representation of nodal lines on the lateral surface of the sample, but also on the sample thickness itself. Let us take an example: the bending test on a rod with a rectangular crosssection. There is a neutral line in the thickness whose motion is representative of bending motion in the first elastodynamic mode. Higher elastodynamic modes correspond to discontinuous or undulating neutral lines in the cross-section. To create such modes, a special array of small piezoelectric exciters can be used. For the usual characterization of material, higher elastodynamic modes are rarely used, although they might constitute a good tool in fracture mechanics. To avoid confusion on the signification of vibration mode, additional indications between brackets will be used: (nature), (eigenfrequency or eigenvalue), (elastodynamics).

In some chapters, theoretical works are presented with proofs so as to facilitate the reader's consultation. Intentionally, Part B is presented with details in the theoretical formulation so as to facilitate the reader's work and reduce his/her burden in the search of scientific papers sometime published some centuries ago! Appendixes presented at the end of each chapter might help researchers to find the demonstration of formulae. For each kind of wave a collection of theories from elementary to sophisticated may present difficulties and a profusion of theories to a reader who approaches the problem for the first time. We have presented a set of theories as a toolbox: practitioners and researchers have to choose the appropriate tool for special applications themselves.

Some readers might be surprised by the unusual length of the chapters in Part B compared to a classical book devoted to the same topics. The authors' intention is to gather together all the possible groups of theories with various degrees of approximations, so the reader does not need to search elsewhere. The contributions of our research team are naturally presented with the intention of completing existing literature on the vibration of rods with finite and infinite lengths.

Coupled vibrations highlight the effect of non-diagonal elastic coefficients in the equations of motion. Coupled vibrations are intentionally used with an off-axis anisotropic rod. Matricial diagonal coefficients being known, such coupled vibrations permit us to evaluate non-diagonal terms.

Coupled vibrations exist even in an isotropic rod submitted to various vibration types, even for a closed section. In elementary theories these vibrations are neglected at lower frequencies. Shear effect in longitudinal and bending vibrations,
however, occurs in equations of motion with higher degrees of approximation. Torsional rod vibration gives rise to axial strain and extensional vibration occurs. Consequently, two or more elastic (or viscoelastic) moduli are present in equations of motion.

The extensive utilization of rods in this book, instead of plates, necessitates explanation. In some technical and scientific publications, plate is indeed used to evaluate elastic (and/or viscoelastic) moduli. The objective of such works is to determine the whole set of elastic moduli. Elastic vibrations of plates necessitate measurements of vibration amplitude at many points and eventually for a certain number of (eigenfrequency) modes. On grounds of numerical calculation, optimization algorithms are referred to. The degree of complexity is considerably increased with respect to that concerning a rod. The challenge of adopting plate equations of motion is prohibitive compared to the one-dimensional equation for a rod with one, two or three displacement variables. The results obtained from plates in the scientific literature are unfortunately far from convincing, with the objective of solving an inverse problem to find moduli or stiffness coefficients of material ${ }^{4}$.

Chapters 5, 6 and 7 present torsional, bending and extensional vibrations. In Chapter 5, a rod with rectangular cross-section is adopted, taking into account the ease of obtaining such a section. Warping of the cross-section is examined for isotropic and anisotropic materials. Saint Venant's dynamic equations of motion are presented as are the higher approximation equations of motion corresponding to more complex section warping.

Bending vibration in Chapter 6 concerns the elementary Bernoulli-Euler's equation of motion. Timoshenko's equation with a higher degree of approximation is preferred when working at a higher frequency. The bending vibration of an offaxis rod is also presented in order to evaluate the compliance a non-diagonal coefficient of anisotropic materials.

Extensional vibrations in a rod are presented in detail in Chapter 7. The longitudinal wave dispersion is surprisingly more difficult to apprehend than the one concerning the two aforementioned vibrations and requires a more elaborate displacement field. For application at higher frequency, the fourth-degree Bishop's equation of motion is not capable of correctly portraying the wave dispersion curve at higher frequencies. Touratier's formulation using internal constraints extends Volterra's work to anisotropic rods.

4 In Chapter 10, however, progressive waves are used in plates to obtain material stiffness coefficients at ultrasonic frequency range

Chapter 8 is devoted to Le Rolland-Sorin's double pendulum working at very low frequency. This inventive, artful and simple method is practically unknown in English-speaking countries and deserves practicians' attention in the sense it requires so few measuring instruments compared to other test methods. The functioning principle is unusual compared to existing methods used in dynamic tests.

Chapter 9 examines vibrations in rings and hollow cylinders. In many situations we have to deal with a curved rod or straight rod with curved cross-section.

Chapter 10 is devoted to the propagation of ultrasonic waves in thick plates. Ultrasonic progressive dilatational (and/or shear) wave can be chosen in advance as can the wave direction. The second-order equation of motion is simple to handle and, surprisingly, the interpretation of experimental results is much easier to obtain than rod vibrations at lower frequencies. Plate samples with a large thickness compared to wavelength are used to equate the plate with a semi-infinite medium. Progressive waves are used for this purpose.

Chapter 11 concerns evaluation of the viscoelastic complex modulus using characteristic (trigonometric and hyperbolic) functions to express displacement components. Transmissibility function (which relates output displacement to input displacement) is used in the framework of an inverse problem to evaluate complex moduli (or compliance). Methods using some special mathematical algorithms are presented in the framework of research of solutions to the important mathematical inverse problems.

Finally, Chapter 12 complements the preceding chapter, using so-called continuous elements. This method is interesting because it offers us the chance to obtain a response curve in a very large frequency range by numerical computation which takes much less time than the finite element method. In our opinion, the matricial formulation of the problem and integration of elastodynamic equations of motion constitute one of the best ways of tackling the inverse viscoelastic problem.

Yvon Chevalier and Jean Tuong Vinh

## Acknowledgements

This book has been written by the two coordinators and authors. Contributions from the team of researchers in our laboratories have been rewritten in a concise manner for readers. The results were obtained over more than 30 years of research in the laboratory of rheology and vibroacoustics of the ISMEP (Institut Supérieur de Mécanique de Paris). The contributions of our colleagues and researchers were important. Technical reports, PhD theses, reports prepared by scholars on short or long stays in our laboratory as well as fruitful contacts with aerospace and aeronautical industries in France and abroad, via many contracts, have enabled the coordinators to present the scientific and technical contributions of the whole laboratory. Thanks are also due to our students and researchers, whose remarks on our courses and practical experiments were very useful.

Mrs Nadège Reisky, our technical secretary, who two years ago patiently typed long chapters with lengthy equations full of mathematical signs and Greek symbols over months and months, is gratefully acknowledged. Without her precious work, this book would never have been published. Anne Vinh, editor and expert in computer layout, was a great help in assisting the coordinators in presenting this book in acceptable form. Her cooperation with Ms Cécile Rault, assistant editor at ISTE, was very fruitful.

Elhadi Brahimi, specialist in technical and scientific design on computers, accepted the difficult task of redrawing nearly all of the innumerable figures, including complicated charts with multiple parameters in intricate interlacing networks! Time and patience were applied by him, over a whole year, in order to present the drawings in an acceptable form.

Jean Baptiste Casimir, assistant professor at ISMEP, was the author of Chapter 12. He also had the knack of creating complementary calculations and experiments over the last months of the university year. He is gratefully acknowledged.

Maurice Touratier, professor at laboratory of materials and structure of the high school ENSAM Paris, our old research fellow and author of Chapter 7, is acknowledged for providing the coordinators with his doctorate and diploma theses.

Finally, last but not least, Ms Cécile Rault is gratefully acknowledged for her advice and useful recommendations to our technical team. Without her help, we wouldn't have reached the deadline we initially promised her.

The last phase of our work consisted in the correction of type-written chapters. All the authors of this book heartily thank several proofreaders in ISTE staff for the extremely efficient way in which they coped with successive versions of galleys. In spite of our effort to present chapters in a comprehensive manner, inevitably the English sentences were often either confusing in their length or too short to be understood by the readers. Their questions and proposals to modify or change the sentences are necessary to us to clarify our ideas.

# Constitutive Equations of Materials 

A lot of theories, yes, but in view of applications

Henri Bouasse
French physicist, 1920

## Chapter 1

## Elements of Anisotropic Elasticity and Complements on Previsional Calculations

The objective of this chapter is to present in a concise form the constitutive equations that relate stresses to strains. Previsional calculations especially adapted for composite materials are succinctly approached in the second part of this chapter. Through experience, we are convinced that this constitutes a useful and practical tool with which to tackle the problem of artificial composite materials that are used in industrial applications.

When we have to deal with isotropic materials, the mathematical formulation of those relationships is reduced to simple expressions. The number of independent elastic constants is reduced to two, from a choice of five. The three remaining constants can be expressed against the two retained. Adoption of a given couple of elastic constants is dependent on various practical considerations, e.g. the shape and size of the sample, available method of testing (static or dynamic), nature of waves (stationary or progressive), etc.

Composite materials, whose utilization is becoming more widespread, are anisotropic in most cases. The formulation of constitutive equations requires more than two elastic constants. Symmetry considerations permit us to adopt the number of constants. Experimenters who want to mechanically characterize these materials cannot avoid these preliminary considerations.

### 1.1. Constitutive equations in a linear elastic regime

Small (infinitesimal) strains are defined from displacements, with $\overrightarrow{\mathrm{u}}=\left(\mathrm{u}_{\mathrm{i}}\right)^{(1)}$ and $\overrightarrow{\mathrm{x}}=\left(\mathrm{x}_{\mathrm{i}}\right)$ being coordinates:

$$
\begin{equation*}
\varepsilon_{\mathrm{ij}}=\frac{1}{2}\left[\frac{\partial \mathrm{u}_{\mathrm{i}}}{\partial \mathrm{x}_{\mathrm{j}}}+\frac{\partial \mathrm{u}_{\mathrm{j}}}{\partial \mathrm{x}_{\mathrm{i}}}\right] \mathrm{i}, \mathrm{j}=1,2,3 \tag{1.1}
\end{equation*}
$$

General Hooke's law expresses the proportionality between stress tensor $\sigma_{\mathrm{ij}}$ and strain tensor $\varepsilon_{\mathrm{ij}}$ :

$$
\begin{equation*}
\sigma_{\mathrm{ij}}=\mathrm{c}_{\mathrm{ij} \mathrm{jl}} \varepsilon_{\mathrm{kl}} \tag{1.2}
\end{equation*}
$$

Equation [1.2] can be inverted and rewritten as:

$$
\begin{equation*}
\varepsilon_{\mathrm{ij}}=\mathrm{s}_{\mathrm{ijk} \mathrm{k}} \sigma_{\mathrm{k} \mathrm{l}} \tag{1.3}
\end{equation*}
$$

Equation [1.3] is used in static tests in which forces are input signals and consequently stresses, and output signals (responses) are displacements or strains. In wave propagation in an elastic medium, the strains are input signals whereas the stresses are responses. Equation [1.2] is then adopted.

Stress and strain tensors each have nine components. Symmetry consideration reduces the number of components to six.

### 1.1.1. Symmetry applied to tensors $s_{i j k l}$ and $c_{i j k l}$

If the deformation energy is evaluated with the assumption that an elastic potential w (deformation energy density) exists so as:

$$
\begin{equation*}
\sigma_{\mathrm{ij}}=\frac{\partial \mathrm{w}}{\partial \varepsilon_{\mathrm{ij}}} \tag{1.4}
\end{equation*}
$$

or:

$$
\begin{equation*}
\mathrm{w}(\mathrm{~B})-\mathrm{w}(\mathrm{~A})=\int_{\mathrm{A}}^{\mathrm{B}} \sigma_{\mathrm{ij}} \mathrm{~d} \varepsilon_{\mathrm{ij}} \tag{1.5}
\end{equation*}
$$

taking into account equation [1.2], [1.4] shows that:

$$
\begin{equation*}
\mathrm{w}=\frac{1}{2} \mathrm{c}_{\mathrm{ijk} 1} \varepsilon_{\mathrm{ij}} \varepsilon_{\mathrm{k} 1}=\frac{1}{2} \sigma_{\mathrm{ij}} \varepsilon_{\mathrm{ij}} \tag{1.6}
\end{equation*}
$$

The deformation energy density $w$ can be evaluated either from strains or stresses:

$$
\left.\begin{array}{l}
\mathrm{w}_{\varepsilon}(\varepsilon)=\frac{1}{2} \mathrm{c}_{\mathrm{ijk} 1}  \tag{1.7}\\
\varepsilon_{\mathrm{ij}} \\
\varepsilon_{\mathrm{k} 1} \\
\mathrm{w}_{\sigma}(\varepsilon)=\frac{1}{2} \mathrm{~s}_{\mathrm{ijk} 1} \\
\sigma_{\mathrm{ij}} \\
\sigma_{\mathrm{k} 1}
\end{array}\right\}
$$

Energy density being a scalar, in relation [1.7] symmetry of stiffness and compliance tensors are obtained:

$$
\left.\begin{array}{l}
C_{i \mathrm{ikl}}=\mathrm{C}_{\mathrm{klii}}  \tag{1.8}\\
\mathrm{~S}_{\mathrm{ijkl}}=\mathrm{S}_{\mathrm{klij}}
\end{array}\right\}
$$

### 1.1.2. Constitutive equations under matrix form

In practical calculations, it is convenient to adopt a matrix representation. Stress and strain tensors are represented by six components instead of nine. Only three components of shear strains and shear stresses are retained.

$$
\begin{align*}
& \{\sigma\}=\{\mathrm{C}\}\{\varepsilon\}  \tag{1.9a}\\
& \{\varepsilon\}=\{\mathrm{S}\}\{\sigma\} \tag{1.9b}
\end{align*}
$$

The following notations are adopted here ${ }^{1}$ :

$$
\begin{align*}
& \{\sigma\}=\left\{\sigma_{11}, \sigma_{22}, \sigma_{33}, \sigma_{23}, \sigma_{31}, \sigma_{12}\right\}^{\mathrm{T}}  \tag{1.10}\\
& \{\varepsilon\}=\left\{\varepsilon_{11}, \varepsilon_{22}, \varepsilon_{33}, 2 \varepsilon_{33}, 2 \varepsilon_{31}, 2 \varepsilon_{12}\right\}^{\mathrm{T}} \tag{1.11}
\end{align*}
$$

[^2]Factor 2 is introduced in [1.11] for shear strains.
The indexes adopted in [1.10] and [1.11] for the three last components are (23), (31) and (12). That is a convention. In other publications, this convention can be replaced by another one. However, the aforementioned convention is the prevalent one.

REMARK ON TENSORIAL WRITING: going from tensorial writing to matrix writing, there is a kind of contraction of indexes. It is difficult to find the meaning of indexes such as 4,5 and 6 . In the study of wave propagation, the adoption of matrix writing gives rise to difficulties in the interpretation of wave characteristics, e.g. polarization of wave plane and direction of wave propagation. In this respect tensorial notations are preferred.

| $\mathrm{C}_{11}=\mathrm{c}_{1111}$ | $\mathrm{C}_{12}=\mathrm{c}_{1122}$ | $\mathrm{C}_{13}=\mathrm{c}_{1133}$ | $\mathrm{C}_{14}=\mathrm{c}_{1123}$ | $\mathrm{C}_{15}=\mathrm{c}_{1131}$ | $\mathrm{C}_{16}=\mathrm{c}_{1112}$ |
| :--- | :--- | :--- | :--- | :--- | :--- |
| $\mathrm{C}_{21}=\mathrm{c}_{2211}$ | $\mathrm{C}_{22}=\mathrm{c}_{2222}$ | $\mathrm{C}_{23}=\mathrm{c}_{2233}$ | $\mathrm{C}_{24}=\mathrm{c}_{2223}$ | $\mathrm{C}_{25}=\mathrm{c}_{2231}$ | $\mathrm{C}_{26}=\mathrm{c}_{2212}$ |
| $\mathrm{C}_{31}=\mathrm{c}_{3311}$ | $\mathrm{C}_{32}=\mathrm{c}_{3322}$ | $\mathrm{C}_{33}=\mathrm{c}_{3333}$ | $\mathrm{C}_{34}=\mathrm{c}_{3323}$ | $\mathrm{C}_{35}=\mathrm{c}_{3331}$ | $\mathrm{C}_{36}=\mathrm{c}_{3312}$ |
| $\mathrm{C}_{41}=\mathrm{c}_{2311}$ | $\mathrm{C}_{42}=\mathrm{c}_{2322}$ | $\mathrm{C}_{43}=\mathrm{c}_{2333}$ | $\mathrm{C}_{44}=\mathrm{c}_{2323}$ | $\mathrm{C}_{45}=\mathrm{c}_{2331}$ | $\mathrm{C}_{46}=\mathrm{c}_{2312}$ |
| $\mathrm{C}_{51}=\mathrm{c}_{3111}$ | $\mathrm{C}_{52}=\mathrm{c}_{3122}$ | $\mathrm{C}_{53}=\mathrm{c}_{3133}$ | $\mathrm{C}_{54}=\mathrm{c}_{3123}$ | $\mathrm{C}_{55}=\mathrm{c}_{3131}$ | $\mathrm{C}_{56}=\mathrm{c}_{3112}$ |
| $\mathrm{C}_{61}=\mathrm{c}_{1211}$ | $\mathrm{C}_{62}=\mathrm{c}_{1222}$ | $\mathrm{C}_{63}=\mathrm{c}_{1233}$ | $\mathrm{C}_{64}=\mathrm{c}_{1223}$ | $\mathrm{C}_{65}=\mathrm{c}_{1231}$ | $\mathrm{C}_{66}=\mathrm{c}_{1212}$ |

Table 1.1. Matrix and tensor components of stiffness

| $\mathrm{S}_{11}=\mathrm{s}_{1111}$ | $\mathrm{~S}_{12}=\mathrm{s}_{1122}$ | $\mathrm{~S}_{13}=\mathrm{s}_{1133}$ | $\mathrm{~S}_{14}=2 \mathrm{~s}_{1123}$ | $\mathrm{~S}_{15}=2 \mathrm{~s}_{1131}$ | $\mathrm{~S}_{16}=2 \mathrm{~s}_{1112}$ |
| :--- | :--- | :--- | :--- | :--- | :--- |
| $\mathrm{~S}_{21}=\mathrm{s}_{2211}$ | $\mathrm{~S}_{22}=\mathrm{s}_{2222}$ | $\mathrm{~S}_{23}=\mathrm{s}_{2233}$ | $\mathrm{~S}_{24}=2 \mathrm{~s}_{2233}$ | $\mathrm{~S}_{25}=2 \mathrm{~s}_{2231}$ | $\mathrm{~S}_{26}=2 \mathrm{~s}_{2212}$ |
| $\mathrm{~S}_{31}=\mathrm{s}_{3311}$ | $\mathrm{~S}_{32}=\mathrm{s}_{3322}$ | $\mathrm{~S}_{33}=\mathrm{s}_{3333}$ | $\mathrm{~S}_{34}=4 \mathrm{~s}_{3323}$ | $\mathrm{~S}_{35}=2 \mathrm{~s}_{3331}$ | $\mathrm{~S}_{36}=2 \mathrm{~s}_{3312}$ |
| $\mathrm{~S}_{41}=2 \mathrm{~s}_{2311}$ | $\mathrm{~S}_{42}=2 \mathrm{~s}_{2322}$ | $\mathrm{~S}_{43}=2 \mathrm{~s}_{2333}$ | $\mathrm{~S}_{44}=4 \mathrm{~s}_{2323}$ | $\mathrm{~S}_{45}=4 \mathrm{~s}_{2331}$ | $\mathrm{~S}_{46}=4 \mathrm{~s}_{2312}$ |
| $\mathrm{~S}_{51}=2 \mathrm{~s}_{3111}$ | $\mathrm{~S}_{52}=2 \mathrm{~s}_{3122}$ | $\mathrm{~S}_{53}=2 \mathrm{~s}_{3133}$ | $\mathrm{~S}_{54}=4 \mathrm{~s}_{3123}$ | $\mathrm{~S}_{55}=4 \mathrm{~s}_{3131}$ | $\mathrm{~S}_{56}=4 \mathrm{~s}_{3112}$ |
| $\mathrm{~S}_{61}=2 \mathrm{~s}_{1211}$ | $\mathrm{~S}_{62}=2 \mathrm{~s}_{1222}$ | $\mathrm{~S}_{63}=2 \mathrm{~s}_{1233}$ | $\mathrm{~S}_{64}=4 \mathrm{~s}_{1223}$ | $\mathrm{~S}_{65}=4 \mathrm{~s}_{3112}$ | $\mathrm{~S}_{66}=4 \mathrm{~s}_{1212}$ |

Table 1.2. Matrix and tensor components of compliance - appearance of coefficient 2 or 4 is due to the adoption of definition of shear strains in equation [1.11]

### 1.2. Technical elastic moduli

These are obtained by industrial tests which are often nearly static ones.

### 1.2.1. Tension tests with one normal stress component $\sigma$

$$
\begin{equation*}
\{\sigma\}=\{\sigma, 0,0,0,0,0\}^{\mathrm{T}} \tag{1.12}
\end{equation*}
$$

is applied in direction 1. The stress state is supposed to be uniaxial and uniform in any sample section.

Bringing [1.12] into [1.9b], the following equations are obtained:

$$
\begin{align*}
& \varepsilon_{11}=\mathrm{S}_{11} \sigma=\frac{\sigma}{\mathrm{E}_{1}}  \tag{1.13a}\\
& \varepsilon_{22}=\mathrm{S}_{21} \sigma=-\frac{v_{21}}{\mathrm{E}_{2}} \sigma  \tag{1.13b}\\
& \varepsilon_{33}=\mathrm{S}_{31} \sigma=-\frac{v_{31}}{\mathrm{E}_{3}} \sigma  \tag{1.13c}\\
& 2 \varepsilon_{23}=\mathrm{S}_{41} \sigma=\frac{\eta_{1,23}}{\mathrm{G}_{23}} \sigma  \tag{1.13d}\\
& 2 \varepsilon_{13}=\mathrm{S}_{51} \sigma=\frac{\eta_{1,13}}{\mathrm{G}_{13}} \sigma  \tag{1.13e}\\
& 2 \varepsilon_{12}=\mathrm{S}_{61} \sigma=\frac{\eta_{1,12}}{\mathrm{G}_{12}} \sigma \tag{1.13f}
\end{align*}
$$

### 1.2.1.1. Young's modulus $E_{I}$

In such tension tests, a straight sample presented as a rod with uniform section is used for Young's modulus calculation. The lateral boundaries must be free surfaces without applied normal stresses [1.12]: ${ }^{2}$

[^3]8 Mechanics of Viscoelastic Materials and Wave Dispersion

$$
\sigma_{22}=\sigma_{33}=0
$$

No shear stresses:

$$
\sigma_{23}=\sigma_{31}=\sigma_{12}=0 .
$$

### 1.2.1.2. Poisson's coefficients

In equations [1.13b] and [1.13c], $v_{21}$ and $v_{31}$ are Poisson's numbers. Symmetry of the compliance matrix implies:

$$
\begin{equation*}
\frac{v_{i j}}{E_{i}}=\frac{v_{j i}}{E_{j}} \tag{1.14}
\end{equation*}
$$

In general $v_{\mathrm{ij}}$ with $\mathrm{i} \neq \mathrm{j}$ represents the contraction of the thickness in direction j with a normal stress applied in direction i:

$$
\varepsilon_{22} / \varepsilon_{11}=-v_{21} \frac{E_{1}}{E_{2}}=-v_{12} .
$$

### 1.2.1.3. Shear moduli

$\mathrm{G}_{\mathrm{ij}}$ with $\mathrm{i} \neq \mathrm{j}$ are used in the last three equations of [1.13]. They are directly evaluated by other tests.

### 1.2.1.4. Lekhnitskii's coefficients $\eta_{i, j}$ with $i \neq j$

In [1.13d] rewritten here:

$$
2 \varepsilon_{23}=\frac{\eta_{1,23}}{\mathrm{G}_{23}}
$$

coefficient $\eta_{1,23}$ describes a shear strain in the plane $(2,3): 2 \varepsilon_{23}$ when a normal stress $\sigma_{11}=\sigma$ is applied in the direction 1.

It describes a coupling (tension shear) which happens in a special direction of anisotropic material.

This direction does not coincide with a direction of symmetry.

### 1.2.2. Shear test

Appropriate loading is applied so the following simple state of stress is obtained:

$$
\begin{equation*}
\{\sigma\}=\{0,0,0,0,0, \tau\}^{\mathrm{T}} \tag{1.15}
\end{equation*}
$$

Bringing [1.15] into [1.9b]:

$$
\begin{align*}
& \varepsilon_{11}=\mathrm{S}_{16} \tau=\frac{\eta_{12,1} \tau}{\mathrm{E}_{1}}  \tag{1.16a}\\
& \varepsilon_{22}=\mathrm{S}_{26} \tau=\frac{\eta_{12,2} \tau}{\mathrm{E}_{2}}  \tag{1.16b}\\
& \varepsilon_{33}=\mathrm{S}_{36} \tau=\frac{\eta_{12,3} \tau}{\mathrm{E}_{3}}  \tag{1.16c}\\
& 2 \varepsilon_{23}=\mathrm{S}_{46} \tau=\frac{\mu_{12,23} \tau}{\mathrm{G}_{23}}  \tag{1.16d}\\
& 2 \varepsilon_{13}=\mathrm{S}_{56} \tau=\frac{\mu_{12,13} \tau}{\mathrm{G}_{13}}  \tag{1.16e}\\
& 2 \varepsilon_{12}=\mathrm{S}_{66} \tau=\frac{\tau}{\mathrm{G}_{12}} \tag{1.16f}
\end{align*}
$$

### 1.2.2.1. Shear or Coulomb's moduli

Equation [1.16f] permits the evaluation of shear modulus. Shear stress $\sigma_{12}=\tau$ is applied in the plane $(1,2)$ and strains $2 \varepsilon_{12}$ are evaluated in the same plane.

The three shear moduli $\mathrm{G}_{23}, \mathrm{G}_{31}, \mathrm{G}_{12}$ are the inverse of the last three diagonal components of a compliance matrix in the case of orthotropic materials.

$$
\begin{equation*}
\mathrm{G}_{\mathrm{ij}}=\frac{1}{\mathrm{C}_{\mathrm{pp}}}, \mathrm{i} \neq \mathrm{j}, \mathrm{p}=9-(\mathrm{i}+\mathrm{j}) \tag{1.17}
\end{equation*}
$$

Let us mention that for anisotropic material, two indexes $\mathrm{ij}(\mathrm{i} \neq \mathrm{j}$ ) are used to describe the plane in which shear stress is applied ${ }^{3}$.

### 1.2.2.2. The Chentsov coefficient

$\mu_{\mathrm{ij}, \mathrm{kl}}$ is the mutual influence coefficient describing shear strain appearing in the plane ( $k, l$ ) when a shear stress is applied in the plane ( $\mathrm{i}, \mathrm{j}$ ).

### 1.2.2.3. Mutual influence coefficient of the first kind

$\eta_{\mathrm{ij}, \mathrm{k}}$ describes the appearance of normal strain $\varepsilon_{\mathrm{kk}}$ when a shear stress $\tau=\tau_{\mathrm{ij}}$ is applied in the plane ( $\mathrm{i}, \mathrm{j}$ ) (relationship [1.16a, b and c]).

### 1.2.2.4. Mutual influence coefficient of the second kind

$\eta_{\mathrm{i}, \mathrm{jk}}$ describes the appearance of a shear strain $\varepsilon_{\mathrm{jk}}$ when a normal stress $\sigma_{\mathrm{ii}}$ is applied in the direction i (relationship [1.13d, e and f]).

Chentsov's and Lekhnitskii's coefficients are not zero where reference axes are not coincident with the symmetry axes of the material. Tables 1.1 and 1.2 provide the tensorial and matricial definitions of elastic coefficients.

### 1.3. Real materials with special symmetries

Real natural or artificial materials have some specific symmetries that reduce the number of independent elastic coefficients. Wood is a natural anisotropic material which is orthotropic. It possesses two orthogonal planes of symmetry. Changing reference axes and taking into account those symmetry planes, we must obtain the same elastic coefficients in the representation of compliance matrix $\{\mathrm{S}\}$ or stiffness matrix $\{\mathrm{C}\}$, see Figure 1.1.

Artificial composite fabricated from a thick layer of unidirectional fibers, which are regularly distributed in the thickness, may be considered as a transverse isotropic material.

The number of elastic constants defined along a symmetry axes is five.
A quasi-transverse isotropic material exists with $90^{\circ}$ of rotation around an axis. It possesses six elastic moduli, see Figure 1.2.

3 For isotropic materials, the two indexes are suppressed.


Figure 1.1. Wood is a natural orthotropic material. It has three orthogonal symmetry planes $(1,3)$ and $(2,3)$

To define the elastic constants of such materials, we shall take general matrices $\{\mathrm{S}\}$ or $\{\mathrm{C}\}$ and by using an appropriate conversion matrix with specific degree of degree, we will obtain new matrices in which the components must be invariant. In what follows, thanks to the change of reference axes, we shall sweep all the possible symmetries that can exist in the materials. We shall successively define various materials in the mechanical classification framework ${ }^{4}$.

### 1.3.1. Change of reference axes

Let the material initially be characterized in reference axes ( $\mathrm{x}, \mathrm{y}, \mathrm{z}$ ). Let us adopt new reference axes ( $x^{\prime}, y^{\prime}, z^{\prime}$ ) which are more appropriate for calculations. In Figure 1.3, a flat unidirectional fiber composite and cylindrical shell obtained by filament helicoidal winding is represented with old and new reference axes.

### 1.3.1.1. Transformation tensors

S and C are of fourth order. Change of reference axes applied to C tensor requires the use of direction cosines $\mathrm{P}_{\mathrm{ij}}$. The new component $\mathrm{c}_{\mathrm{ijkl}}{ }^{\text {i }}$ is expressed versus the old components $\mathrm{c}_{\text {pqrs }}$ as:

$$
\left.\begin{array}{l}
c_{\mathrm{ijk} 1 \mathrm{l}}^{\prime}=\mathrm{c}_{\mathrm{pqrs}} \mathrm{P}_{\mathrm{pi}} \mathrm{P}_{\mathrm{qj}} \mathrm{P}_{\mathrm{rk}} \mathrm{P}_{\mathrm{sl}}  \tag{1.18}\\
\mathrm{c}_{\mathrm{i} \mathrm{j} \mathrm{k} 1}=\mathrm{c}_{\mathrm{pqrs}}^{\prime} \mathrm{P}_{\mathrm{ip}} \mathrm{P}_{\mathrm{jq}} \mathrm{P}_{\mathrm{kr}} \mathrm{P}_{\mathrm{ls}}
\end{array}\right]
$$

[^4]

Figure 1.2. Artificial composite made with unidirectional fibers regularly distributed in the plane (1, 2). It has a symmetry axis (0, 3). In the plane (1, 2) orthogonal to the symmetry axis, the material is isotropic. The material is a transverse isotropic one

In spite of its apparent simplicity, equation [1.18] requires attention and in the second member there is a sum of terms. Often in the calculation some of the terms are omitted. In practice, using matrices is easier when carrying out manual calculation as well as computer code calculation.

### 1.3.1.2. Passage matrices for stress and strain

Stress and strain are second-order tensors. Changing reference axes, new stresses $\sigma_{\mathrm{ij}}^{\prime}$ and new strains $\varepsilon^{\prime}{ }^{\mathrm{ij}}$ are:

$$
\begin{align*}
& \sigma_{\mathrm{ij}}^{\prime}=\mathrm{P}_{\mathrm{k} \mathrm{i}} \mathrm{P}_{\mathrm{lj}} \sigma_{\mathrm{kl}}, \sigma_{\mathrm{ij}}=\mathrm{P}_{\mathrm{ik}} \mathrm{P}_{\mathrm{j} 1} \sigma_{\mathrm{k} 1}^{\prime}  \tag{1.19a}\\
& \varepsilon_{\mathrm{ij}}^{\prime}=\mathrm{P}_{\mathrm{ki}} \mathrm{P}_{\mathrm{lj}} \varepsilon_{\mathrm{kl}}, \varepsilon_{\mathrm{ij}}=\mathrm{P}_{\mathrm{ik}} \mathrm{P}_{\mathrm{j} 1} \sigma_{\mathrm{k} 1}^{\prime} \tag{1.19b}
\end{align*}
$$

The following transformation matrix is used:

$$
[\mathrm{P}]=\begin{align*}
& \mathrm{x}^{\prime}  \tag{1.20}\\
& \mathrm{y}^{\prime} \\
& \mathrm{z}^{\prime}
\end{align*}\left[\begin{array}{ccc}
\mathrm{x} & \mathrm{y} & \mathrm{z} \\
\mathrm{P}_{11} & \mathrm{P}_{12} & \mathrm{P}_{13} \\
\mathrm{P}_{21} & \mathrm{P}_{22} & \mathrm{P}_{23} \\
\mathrm{P}_{31} & \mathrm{P}_{32} & \mathrm{P}_{33}
\end{array}\right]
$$

to go from references $(\mathrm{x}, \mathrm{y}, \mathrm{z})$ to new references $\left(\mathrm{x}^{\prime}, \mathrm{y}^{\prime}, \mathrm{z}^{\prime}\right)$. Rotation is with angle $\alpha$ around axis z .

The transformation matrix is:

$$
[\mathrm{P}]=\left[\begin{array}{ccc}
\cos \alpha & -\sin \alpha & 0  \tag{1.21}\\
\sin \alpha & \cos \alpha & 0 \\
0 & 0 & 0
\end{array}\right]
$$



(b)

Figure 1.3. a) Off-axis rod with unidirectional fibers; b) Cylindrical shell with helicoidal winding

Matrix $[\mathrm{P}]$ is orthogonal, which means that the column vectors (or line vectors) are orthonormal: $[\mathrm{P}]^{\mathrm{T}}=$ transpose of $[\mathrm{P}]$ with an interchange of lines and columns.

$$
\begin{equation*}
[\mathrm{P}]^{1}=[\mathrm{P}]^{\top} \Rightarrow\left[\mathrm{P}^{-1}\right]_{\mathrm{i}}=\mathrm{P}_{\mathrm{n}} \tag{1.22}
\end{equation*}
$$

1.3.1.3. Change of axes for second-order tensors

$$
\begin{equation*}
[\sigma]=[\mathrm{p}]^{\prime}[\sigma][\mathrm{p}] \tag{1.23}
\end{equation*}
$$

$$
\begin{equation*}
[\varepsilon]=[P]^{-1}[\varepsilon][P] \tag{1.24}
\end{equation*}
$$

and then:

$$
\begin{align*}
& \left\{\sigma^{\prime}\right\}=\left\{M_{\sigma}\right\}\{\sigma\}  \tag{1.25}\\
& \left\{\varepsilon^{\prime}\right\}=\left\{M_{\varepsilon}\right\}\{\varepsilon\} \tag{1.26}
\end{align*}
$$



Figure 1.4. Rotation around $z$ axis

The $6 \times 6$ matrices $\left\{M_{\sigma}\right\}$ and $\left\{M_{\varepsilon}\right\}$ are defined as follows:

$$
\left\{\mathrm{M}_{\sigma}\right\}=\left[\begin{array}{cc}
{\left[\mathrm{D}_{1}\right]} & 2[\mathrm{~A}]  \tag{1.27}\\
{[\mathrm{B}]} & {\left[\mathrm{D}_{2}\right]}
\end{array}\right],\left\{\mathrm{M}_{\varepsilon}\right\}=\left[\begin{array}{lr}
{\left[\mathrm{D}_{1}\right]} & {[\mathrm{A}]} \\
2[\mathrm{~B}] & {\left[\mathrm{D}_{2}\right]}
\end{array}\right]
$$

In equation [1.27], square sub-matrices are defined as:

$$
\begin{align*}
& {[\mathrm{A}]=} \\
& {[\mathrm{B}]=\left[\begin{array}{lll}
\mathrm{P}_{21} \mathrm{P}_{31} & \mathrm{P}_{11} \mathrm{P}_{31} & \mathrm{P}_{11} \mathrm{P}_{21} \\
\mathrm{P}_{22} \mathrm{P}_{32} & \mathrm{P}_{12} \mathrm{P}_{32} & \mathrm{P}_{12} \mathrm{P}_{22} \\
\mathrm{P}_{23} \mathrm{P}_{33} & \mathrm{P}_{13} \mathrm{P}_{33} & \mathrm{P}_{13} \mathrm{P}_{23}
\end{array}\right],}  \tag{1.28}\\
& {\left[\begin{array}{lll}
\mathrm{P}_{12} \mathrm{P}_{13} & \mathrm{P}_{22} \mathrm{P}_{23} & \mathrm{P}_{32} \mathrm{P}_{33} \\
\mathrm{P}_{11} \mathrm{P}_{13} & \mathrm{P}_{21} \mathrm{P}_{23} & \mathrm{P}_{31} \mathrm{P}_{33} \\
\mathrm{P}_{11} \mathrm{P}_{12} & \mathrm{P}_{21} \mathrm{P}_{22} & \mathrm{P}_{31} \mathrm{P}_{32}
\end{array}\right],}
\end{align*}
$$

$$
\begin{aligned}
& {\left[\mathrm{D}_{1}\right]=\left[\begin{array}{lll}
\mathrm{P}_{11}^{2} & \mathrm{P}_{21}^{2} & \mathrm{P}_{31}^{2} \\
\mathrm{P}_{12}^{2} & \mathrm{P}_{22}^{2} & \mathrm{P}_{32}^{2} \\
\mathrm{P}_{13}^{2} & \mathrm{P}_{23}^{2} & \mathrm{P}_{33}^{2}
\end{array}\right],} \\
& {\left[\mathrm{D}_{2}\right]=\left[\begin{array}{lll}
\mathrm{P}_{22} \mathrm{P}_{33}+\mathrm{P}_{32} \mathrm{P}_{23} & \mathrm{P}_{12} \mathrm{P}_{33}+\mathrm{P}_{32} \mathrm{P}_{13} & \mathrm{P}_{12} \mathrm{P}_{23}+\mathrm{P}_{22} \mathrm{P}_{13} \\
\mathrm{P}_{21} \mathrm{P}_{33}+\mathrm{P}_{31} \mathrm{P}_{23} & \mathrm{P}_{11} \mathrm{P}_{33}+\mathrm{P}_{31} \mathrm{P}_{13} & \mathrm{P}_{11} \mathrm{P}_{23}+\mathrm{P}_{21} \mathrm{P}_{13} \\
\mathrm{P}_{21} \mathrm{P}_{32}+\mathrm{P}_{31} \mathrm{P}_{22} & \mathrm{P}_{11} \mathrm{P}_{32}+\mathrm{P}_{31} \mathrm{P}_{12} & \mathrm{P}_{11} \mathrm{P}_{22}+\mathrm{P}_{21} \mathrm{P}_{12}
\end{array}\right],}
\end{aligned}
$$

Equations [1.19a] and [1.19b] show that:

$$
\left\{\mathrm{M}_{\sigma}\right\}^{-1}=\left\{\mathrm{M}_{\varepsilon}\right\}^{\mathrm{T}}=\left[\begin{array}{cc}
{\left[\mathrm{D}_{1}\right]^{\mathrm{T}}} & 2[\mathrm{~B}]^{\mathrm{T}} \\
{[\mathrm{~A}]^{\mathrm{T}}} & {\left[\mathrm{D}_{2}\right]^{\mathrm{T}}}
\end{array}\right]
$$

$$
\left\{\mathrm{M}_{\varepsilon}\right\}^{-1}=\left\{\mathrm{M}_{\sigma}\right\}^{\mathrm{T}}=\left[\begin{array}{cc}
{\left[\mathrm{D}_{1}\right]^{\mathrm{T}}} & {[\mathrm{~B}]^{\mathrm{T}}} \\
2[\mathrm{~A}]^{\mathrm{T}} & {\left[\mathrm{D}_{2}\right]^{\mathrm{T}}}
\end{array}\right]
$$

Matrices $\left\{\mathrm{M}_{\sigma}\right\}$ and $\left\{\mathrm{M}_{\varepsilon}\right\}$ are not identical because of the adopted definition of the strain vector (equation [1.11]). In the last three components, factor 2 is introduced to describe shear strains.

Rewriting [1.25], [1.26] and [1.27] is accounted for:

$$
\begin{align*}
& \left\{\sigma^{\prime}\right\}=\left\{M_{\sigma}\right\}\{\sigma\}, \quad\{\sigma\}=\left\{M_{\varepsilon}\right\}^{\mathrm{T}}\left\{\sigma^{\prime}\right\} \\
& \left\{\varepsilon^{\prime}\right\}=\left\{M_{\varepsilon}\right\}\{\varepsilon\}, \quad\{\varepsilon\}=\left\{M_{\sigma}\right\}^{\mathrm{T}}\left\{\varepsilon^{\prime}\right\} \tag{1.30}
\end{align*}
$$

1.3.1.4. Change of reference axes for $\{C\}$ and $\{S\}$ matrices

$$
\begin{array}{lr}
\{\sigma\}=\{\mathrm{C}\}\{\varepsilon\} & \{\varepsilon\}=\{\mathrm{S}\}\{\sigma\} \\
\left\{\sigma^{\prime}\right\}=\left\{\mathrm{C}^{\prime}\right\}\left\{\varepsilon^{\prime}\right\} & \left\{\varepsilon^{\prime}\right\}=\left\{\mathrm{S}^{\prime}\right\}\left\{\sigma^{\prime}\right\} \tag{1.31}
\end{array}
$$

Bringing [1.30] into [1.31], we get:

$$
\begin{align*}
& \left\{\mathrm{C}^{\prime}\right\}=\left\{\mathrm{M}_{\sigma}\right\}\{\mathrm{C}\}\left\{\mathrm{M}_{\sigma}\right\}^{\mathrm{T}} \\
& \left\{\mathrm{~S}^{\prime}\right\}=\left\{\mathrm{M}_{\varepsilon}\right\}\{\mathrm{C}\}\left\{\mathrm{M}_{\varepsilon}\right\}^{\mathrm{T}} \tag{1.32}
\end{align*}
$$

Matricial equalities in [1.32] portray tensorial laws defined in equations [1.19a] and [1.19b].

### 1.3.1.5. Rotation around axis $z$

Equation [1.21] gives the [P] matrix, from which submatrices [A] [B] [D] and $\left[D_{2}\right]$ are evaluated, see Figure 1.4.

$$
\begin{aligned}
& {[\mathrm{A}]=\left[\begin{array}{ccc}
0 & 0 & \sin \alpha \cos \alpha \\
0 & 0 & -\sin \alpha \cos \alpha \\
0 & 0 & 0
\end{array}\right]} \\
& {[\mathrm{B}]=\left[\begin{array}{ccc}
0 & 0 & 0 \\
0 & 0 & 0 \\
-\sin \alpha \cos \alpha & \sin \alpha \cos \alpha & 0
\end{array}\right]} \\
& {\left[\mathrm{D}_{1}\right]=\left[\begin{array}{ccc}
\cos ^{2} \alpha & \sin ^{2} \alpha & 0 \\
\sin ^{2} \alpha & \cos ^{2} \alpha & 0 \\
0 & 0 & 1
\end{array}\right]} \\
& {\left[\mathrm{D}_{2}\right]=\left[\begin{array}{ccc}
\cos \alpha & -\sin \alpha & 0 \\
\sin \alpha & \cos \alpha & 0 \\
0 & 0 & \cos 2 \alpha
\end{array}\right]}
\end{aligned}
$$

### 1.3.2. Orthotropic materials possess two orthogonal planes of symmetry

Passage matrix has diagonal form (see Figure 1.1):

$$
[\mathrm{P}]=\left[\begin{array}{ccc}
1 & 0 & 0  \tag{1.34}\\
0 & 1 & 0 \\
0 & 0 & -1
\end{array}\right]
$$

$\left\{\mathrm{M}_{\sigma}\right\}$ and $\left\{\mathrm{M}_{\varepsilon}\right\}$ defined in equation [1.27] are diagonal and identical, with the exception of the fourth and fifth terms, where it is equal to -1. Post multiplication of the stiffness matrix by $\left\{\mathrm{M}_{\sigma}\right\}^{\mathrm{T}}$ changes the signs of the fourth and fifth columns of this last matrix. Pre-multiplication $\left[\mathrm{M}_{\sigma}\right]$, however, changes the sign of the fourth and fifth lines:

$$
\left\{\mathrm{C}^{\prime}\right\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{13} & -\mathrm{C}_{14} & -\mathrm{C}_{15} & \mathrm{C}_{16}  \tag{1.35}\\
& \mathrm{C}_{22} & \mathrm{C}_{23} & -\mathrm{C}_{24} & -\mathrm{C}_{25} & \mathrm{C}_{26} \\
& & \mathrm{C}_{33} & -\mathrm{C}_{34} & -\mathrm{C}_{35} & \mathrm{C}_{36} \\
\operatorname{sym} & & & \mathrm{C}_{44} & \mathrm{C}_{45} & -\mathrm{C}_{46} \\
& & & & \mathrm{C}_{55} & -\mathrm{C}_{56} \\
& & & & & \mathrm{C}_{66}
\end{array}\right]
$$

the plane $(1,2)$ being symmetric $\left\{\mathrm{C}^{\prime}\right\}=\{\mathrm{C}\}$.
Comparing original matrix $\{\mathrm{C}\}$ with equation [1.34], we must set components that change sign to zero.

$$
[\mathrm{C}]=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{13} & 0 & 0 & \mathrm{C}_{16}  \tag{1.36}\\
& \mathrm{C}_{22} & \mathrm{C}_{23} & 0 & 0 & \mathrm{C}_{26} \\
& & \mathrm{C}_{33} & 0 & 0 & \mathrm{C}_{36} \\
\text { sym } & & & \mathrm{C}_{44} & \mathrm{C}_{45} & 0 \\
& & & & \mathrm{C}_{55} & 0 \\
& & & & & \mathrm{C}_{66}
\end{array}\right]
$$

A second symmetry with respect to plane $(2,3)$ or $(y, z)$ with similar reasoning gives rise to the following matrix:

$$
\{\mathrm{C}\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{13} & 0 & 0 & 0  \tag{1.37}\\
& \mathrm{C}_{22} & \mathrm{C}_{23} & 0 & 0 & 0 \\
& & \mathrm{C}_{33} & 0 & 0 & 0 \\
\mathrm{sym} & & & \mathrm{C}_{44} & 0 & 0 \\
& & & & \mathrm{C}_{55} & 0 \\
& & & & & \mathrm{C}_{66}
\end{array}\right]
$$

Orthotropic material has three orthogonal planes of symmetry and is characterized by nine independent moduli, nine stiffness [1.37], or nine technical moduli [1.38]:

$$
\{\mathrm{S}\}=\{\mathrm{C}\}^{-1}=\left[\begin{array}{cccccc}
\frac{1}{\mathrm{E}_{1}} & -\frac{v_{12}}{\mathrm{E}_{1}} & -\frac{v_{13}}{\mathrm{E}_{1}} & 0 & 0 & 0  \tag{1.38}\\
& \frac{1}{\mathrm{E}_{2}} & -\frac{v_{23}}{\mathrm{E}_{2}} & 0 & 0 & 0 \\
& & \frac{1}{\mathrm{E}_{3}} & 0 & 0 & 0 \\
\operatorname{sym} & & & \frac{1}{\mathrm{G}_{23}} & 0 & 0 \\
& & & & \frac{1}{\mathrm{G}_{13}} & 0 \\
& & & & & \frac{1}{\mathrm{G}_{12}}
\end{array}\right]
$$

An example of a natural orthotropic material is Douglas pinewood.
Samples are taken far from the axes of the trunk body. The stiffness matrix was evaluated and components of $\{\mathrm{C}\}$ are expressed in MPa.

$$
\{\mathrm{C}\}_{\mathrm{MPa}}=\left[\begin{array}{cccccc}
17,000 & 2,950 & 1,500 & 0 & 0 & 0  \tag{1.39}\\
2,950 & 2,350 & 1,100 & 0 & 0 & 0 \\
1,500 & 1,100 & 2,800 & 0 & 0 & 0 \\
0 & 0 & 0 & 250 & 0 & 0 \\
0 & 0 & 0 & 0 & 1,100 & 0 \\
0 & 0 & 0 & 0 & 0 & 1,550
\end{array}\right]
$$

Technical elastic moduli were experimentally evaluated, from which rigidity matrix [1.39] is deduced.

$$
\begin{array}{lll}
\mathrm{E}_{1}=13,300 \mathrm{MPa} & \mathrm{E}_{2}=1,550 \mathrm{MPa} & \mathrm{E}_{3}=2,280 \mathrm{MPa} \\
v_{12}=1.23 & v_{13}=0.052 & v_{23}=0.314
\end{array}
$$

$$
\begin{array}{lll}
v_{21}=0.145 & v_{31}=0.009 & v_{32}=0.456 \\
\mathrm{G}_{23}=250 \mathrm{MPa} & \mathrm{G}_{13}=1,100 \mathrm{MPa} & \mathrm{G}_{12}=1,350 \mathrm{MPa}
\end{array}
$$

### 1.3.3. Quasi-isotropic transverse (tetragonal) material

In Figure 1.3a (the off-axis rod with unidirectional fibers) the plane of the unidirectional layers are superposed respectively at $0^{\circ}$ and $90^{\circ}$. This geometry concerns orthotropic material that remains invariant with $90^{\circ}$ rotation around an axis perpendicular to the layers (axis 3). We start with matrix $\{\mathrm{C}\}$ in [1.36] for an orthotropic material. Axis 3 being used for $\pi / 2$ rotation, we must obtain six independent elastic moduli.

$$
\{\mathrm{C}\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{13} & 0 & 0 & 0  \tag{1.40}\\
& \mathrm{C}_{11} & \mathrm{C}_{13} & 0 & 0 & 0 \\
& & \mathrm{C}_{33} & 0 & 0 & 0 \\
\text { sym } & & & \mathrm{C}_{44} & 0 & 0 \\
& & & & \mathrm{C}_{44} & 0 \\
& & & & & \mathrm{C}_{66}
\end{array}\right]
$$



Figure 1.5. Quasi-isotropic transverse artificial material made with successive layers at $0^{\circ}$ and $90^{\circ}$

An example of this is a multilayered composite made with taffeta tissues -carbon-epoxy with high-strength fibers being $56 \%$ in volume.

$$
\begin{array}{ll}
\mathrm{E}_{1}=\mathrm{E}_{2}=57.8 \mathrm{GPa}, & \mathrm{E}_{3}=6.9 \mathrm{GPa} \\
v_{12}=v_{21}=0.025 & v_{13}=v_{23}=0.585 \\
v_{31}=v_{32}=0.070 & \\
\mathrm{G}_{23}=\mathrm{G}_{13}=3.3 \mathrm{GPa} & \mathrm{G}_{13}=18.0 \mathrm{GPa}
\end{array}
$$

### 1.3.4. Transverse isotropic materials (hexagonal system)

Figure 1.6 represents such an artificial material.
The plane representing a section is a plane of symmetry.
We can consider this to be a special orthotropic material, such that a rotation around z axis with any angle does not modify the elastic constants.

That is:

$$
\begin{equation*}
\mathrm{C}_{11}=\mathrm{C}_{22} \tag{1.41}
\end{equation*}
$$

and:

$$
\begin{equation*}
\mathrm{C}_{66}=2\left(\mathrm{C}_{11}-\mathrm{C}_{12}-2 \mathrm{C}_{66}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{C}_{66} \tag{1.42}
\end{equation*}
$$

If we make the bracket equal to zero:

$$
\begin{equation*}
\mathrm{C}_{66}=\frac{\mathrm{C}_{11}-\mathrm{C}_{12}}{2} \tag{1.43}
\end{equation*}
$$

we get the transverse isotropic relationship.
An example of this is a glass-epoxy transverse isotropic composite, $65 \%$ of fiber in volume.


Figure 1.6. Transverse isotropic material. $z$ is the fiber axis

$$
\{\mathrm{C}\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{13} & 0 & 0 & 0  \tag{1.44}\\
& \mathrm{C}_{11} & \mathrm{C}_{13} & 0 & 0 & 0 \\
& & \mathrm{C}_{33} & 0 & 0 & 0 \\
\text { sym } & & & \mathrm{C}_{44} & 0 & 0 \\
& & & & \mathrm{C}_{44} & 0 \\
& & & & & \mathrm{C}_{66}=\frac{\mathrm{C}_{11}-\mathrm{C}_{12}}{2}
\end{array}\right]
$$

Elastic moduli:

$$
\begin{array}{ll}
\mathrm{E}_{1}=\mathrm{E}_{2}=18.5 \mathrm{GPa} & \mathrm{E}_{3}=58.9 \mathrm{GPa} \\
v_{12}=v_{12}=0.425, & v_{13}=v_{23}=0.038, \\
\mathrm{G}_{23}=\mathrm{G}_{13}=7.25 \mathrm{GPa} & \mathrm{G}_{12}=6.5 \mathrm{GPa}
\end{array}
$$

### 1.3.5. Quasi-isotropic material (cubic system)

Such a material has three principal orthogonal axes of symmetry. A rotation with any angle around one of those axes must give rise to the same material. We take an orthotropic material and operate rotation:

$$
\{\mathrm{C}\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{12} & 0 & 0 & 0  \tag{1.45}\\
& \mathrm{C}_{11} & \mathrm{C}_{12} & 0 & 0 & 0 \\
& & \mathrm{C}_{11} & 0 & 0 & 0 \\
\text { sym } & & & \mathrm{C}_{44} & 0 & 0 \\
& & & & \mathrm{C}_{44} & 0 \\
& & & & & \mathrm{C}_{44}
\end{array}\right]
$$

Such a material has three independent elastic moduli. A three-dimensional composite with reinforcement in three orthogonal directions has special application in aeronautics.

### 1.3.6. Isotropic materials

We start with [1.45] concerning a quasi-isotropic material and we apply the transverse isotropic relationship [1.41] in order to get sheer stiffness coefficients.

$$
\{\mathrm{C}\}=\left[\begin{array}{cccccc}
\mathrm{C}_{11} & \mathrm{C}_{12} & \mathrm{C}_{12} & 0 & 0 & 0 \\
& \mathrm{C}_{11} & \mathrm{C}_{12} & 0 & 0 & 0 \\
& & \mathrm{C}_{11} & 0 & 0 & 0 \\
& & & \frac{\mathrm{C}_{11}-\mathrm{C}_{12}}{2}=\mathrm{C}_{44} & 0 & 0 \\
\text { sym } & & & \frac{\mathrm{C}_{11}-\mathrm{C}_{12}}{2}=\mathrm{C}_{55} & 0 \\
& & & & & \frac{\mathrm{C}_{11}-C_{12}}{2}=C_{66}
\end{array}\right]
$$

Two independent elastic constants $\mathrm{C}_{11}$ and $\mathrm{C}_{12}$ are used - stiffness matrix components versus Lamé's coefficients. Lamé proposed the two independent elastic constants $\lambda$ and $\mu$ :

$$
\begin{aligned}
& \mathrm{C}_{11}=\lambda+2 \mu \\
& \mathrm{C}_{12}=\lambda
\end{aligned}
$$

Then when $\mathrm{C}_{\mathrm{ii}}=\mu=\mathrm{G}$ with $\mathrm{i} \geq 4, \mu=\mathrm{G}$, the shear modulus is called Coulomb's modulus.

Compliance matrix [S] is:


Usually the components of a compliance matrix are written versus the two independent elastic moduli, E and $v$ being the Poisson's number.

### 1.4. Relationship between compliance $\mathrm{S}_{\mathrm{ij}}$ and stiffness $\mathrm{C}_{\mathrm{ij}}$ for orthotropic materials

Matrix inversion permits the calculation of compliances:

$$
\begin{aligned}
& \mathrm{S}_{11}=\frac{\mathrm{C}_{22} \mathrm{C}_{33}-\mathrm{C}_{23}^{2}}{\Delta \mathrm{C}}=\frac{1}{\mathrm{E}_{1}}, \mathrm{~S}_{12}=\frac{\mathrm{C}_{23} \mathrm{C}_{13}-\mathrm{C}_{33} \mathrm{C}_{12}}{\Delta \mathrm{C}}=-\frac{v_{12}}{\mathrm{E}_{1}} \\
& \mathrm{~S}_{22}=\frac{\mathrm{C}_{33} \mathrm{C}_{11}-\mathrm{C}_{13}^{2}}{\Delta \mathrm{C}}=\frac{1}{\mathrm{E}_{2}}, \mathrm{~S}_{13}=\frac{\mathrm{C}_{12} \mathrm{C}_{23}-\mathrm{C}_{22} \mathrm{C}_{13}}{\Delta \mathrm{C}}=-\frac{v_{13}}{\mathrm{E}_{1}} \\
& \mathrm{~S}_{33}=\frac{\mathrm{C}_{11} \mathrm{C}_{22}-\mathrm{C}_{12}^{2}}{\Delta \mathrm{C}}=\frac{1}{\mathrm{E}_{3}}, \mathrm{~S}_{23}=\frac{\mathrm{C}_{13} \mathrm{C}_{12}-\mathrm{C}_{11} \mathrm{C}_{23}}{\Delta \mathrm{C}}=-\frac{v_{23}}{\mathrm{E}_{1}} \\
& \mathrm{~S}_{44}=\frac{1}{\mathrm{C}_{44}}=\frac{1}{\mathrm{G}_{23}}, \quad \mathrm{~S}_{55}=\frac{1}{\mathrm{C}_{55}}=\frac{1}{\mathrm{G}_{31}}, \quad \mathrm{~S}_{66}=\frac{1}{\mathrm{C}_{66}}=\frac{1}{\mathrm{G}_{12}}
\end{aligned}
$$

with

$$
\begin{equation*}
\Delta \mathrm{C}=\mathrm{C}_{11} \mathrm{C}_{22} \mathrm{C}_{33}+2 \mathrm{C}_{12} \mathrm{C}_{23} \mathrm{C}_{31}-\mathrm{C}_{12}^{2} \mathrm{C}_{33}-\mathrm{C}_{23}^{2} \mathrm{C}_{11}-\mathrm{C}_{13}^{2} \mathrm{C}_{22} \tag{1.46}
\end{equation*}
$$

Permutation of symbols $S$ and $C$ in [1.42] enables us to obtain the rigidity (or stiffness) matrix versus compliance matrix:

$$
\begin{array}{ll}
C_{11}=\frac{1-v_{23} v_{32}}{E_{2} E_{3} \Delta S}, & C_{12}=\frac{v_{21}+v_{23} v_{31}}{E_{2} E_{3} \Delta S} \\
C_{22}=\frac{1-v_{31} v_{13}}{E_{3} E_{1} \Delta S}, & C_{13}=\frac{v_{13}+v_{12} v_{23}}{E_{1} E_{2} \Delta S} \\
C_{23}=\frac{1-v_{12} v_{21}}{E_{1} E_{2} \Delta S}, \quad C_{23}=\frac{v_{32}+v_{31} v_{12}}{E_{3} E_{1} \Delta S} \\
C_{44}=\frac{1}{S_{44}}=G_{23}, C_{55}=\frac{1}{S_{55}}=G_{13}, C_{66}=\frac{1}{S_{66}}=G_{12} \\
\Delta S=\frac{1-v_{12} v_{21}-v_{23} v_{32}-v_{31} v_{13}-2 v_{21} v_{13} v_{32}}{E_{1} E_{2} E_{3}} \tag{1.47}
\end{array}
$$

with:

$$
v_{12} v_{23} v_{31}=v_{21} v_{13} v_{32}
$$

### 1.5. Useful inequalities between elastic moduli

Elastic systems are stable. This means that the deformation energy of such systems in order to change from natural state to deformed state must be positive. Consequently, the stiffness matrix as well as the compliance matrix must be positive.

These considerations, presented below, are useful for practitians when checking the calculations of components of stiffness and compliance matrices.

### 1.5.1. Orthotropic materials

In [1.37] and [1.38], the following inequalities are obtained:

$$
\begin{align*}
& \mathrm{C}_{\mathrm{ij}}^{2}<\mathrm{C}_{\mathrm{ii}} \mathrm{C}_{\mathrm{ij}} \\
& \mathrm{~S}_{\mathrm{ij}}^{2}<\mathrm{S}_{\mathrm{ii}} \mathrm{~S}_{\mathrm{ij}} \quad \mathrm{i}, \mathrm{j}=1,2, \ldots, 5,6 \tag{1.48}
\end{align*}
$$

From [1.48] and [1.14] we must obtain:

$$
\begin{equation*}
1-v i j v j i>0 i, j=1,2,3 \tag{1.49}
\end{equation*}
$$

and also:

$$
\frac{1}{E_{i} E_{j}}>\frac{v_{i j} v_{j i}}{E_{i} E_{j}}=\frac{v_{i j}^{2}}{E_{i}^{2}}
$$

or:

$$
\begin{equation*}
v_{i j}^{2}<\frac{E_{i}}{E_{j}} \quad i, j=1,2,3 \tag{1.50}
\end{equation*}
$$

Matrix $S$ is positive if and only if its eigenvalues are positive.
Determinants $\Delta \mathrm{C}$ and $\Delta \mathrm{S}$ in [1.46] and [1.47], being respectively the products of eigenvalues of stiffness and compliances, are positive:

$$
1-v_{12}-v_{21}-v_{23}-v_{32}-v_{31}-v_{13}-2 v_{12} v_{32} v_{13}>0
$$

This equation can be rearranged as $\mathrm{p}-\mathrm{p}$ :

$$
v_{12} v_{13} v_{32}<\frac{1-v_{12} v_{21}-v_{23} v_{32}-v_{31} v_{13}}{2}<\frac{1}{2}
$$

Poisson's number being positive, and finally:

$$
\begin{equation*}
v_{12} v_{23} v_{31}=v_{21} v_{13} v_{32}<\frac{1}{2} \tag{1.51}
\end{equation*}
$$

### 1.5.2. Quasi-transverse isotropic materials

If the plane $(1,2)$ is the quasi-isotropic one, the first three eigenvalues of the stiffness matrix are the solution of the third-degree equation:

$$
\left(\mathrm{C}_{11}-\mathrm{C}_{12}-\lambda\right)\left\{\lambda^{2}-\left(\mathrm{C}_{11}+\mathrm{C}_{12}+\mathrm{C}_{33}\right) \lambda+\mathrm{C}_{33}\left(\mathrm{C}_{11}+\mathrm{C}_{12}\right)-2 \mathrm{C}_{13}^{2}\right\}
$$

The eigenvalues are positive if and only if:

$$
\begin{align*}
& \mathrm{C}_{11}>\mathrm{C}_{12} \\
& \mathrm{C}_{44}=\mathrm{C}_{55}>0 \\
& \mathrm{C}_{11}+\mathrm{C}_{12}+\mathrm{C}_{33}>0  \tag{1.52}\\
& \mathrm{C}_{11}+\mathrm{C}_{12}>\frac{2 \mathrm{C}_{13}^{2}}{\mathrm{C}_{33}}
\end{align*}
$$

A similar relationship can be obtained for the compliance matrix by substituting symbol S for C . The last two inequalities of [1.52] give rise to the following inequalities:

$$
\begin{align*}
& v_{12}<1+\frac{E_{1}}{E_{3}}  \tag{1.53}\\
& v_{13} v_{31}<\frac{1-v_{12}}{2}
\end{align*}
$$

### 1.5.3. Transverse isotropic, quasi-isotropic, and isotropic materials

Equations [1.47] and [1.48] are satisfied for the three classes of materials, taking into account components of matrices C and S for each type of material.

For isotropic and quasi-isotropic materials, the second part of equation [1.48] shows that $v<0.5$.

### 1.6. Transformation of reference axes is necessary in many circumstances

### 1.6.1. Practical examples

Samples of composite materials are intentionally tailored in such a way that the axes of the samples do not coincide with the natural axes of the material. Stiffness or compliance matrices are consequently evaluated with sample reference axes.

Multilayered artificial composites for aerospace applications are made with superposition of a certain number of layers glued together. Each layer has its own orientation of reinforced fibers. In the calculation of global stiffness or compliance of the composites, transformation of the reference axis in each layer is necessary for the computation, using finite elements of the structure.

In a mechanical structure using multilayered composite materials, some components of the elastic compliance matrix of the materials are required. The problem is finding an optimized multilayered composite with the relevant number of layers and orientation of fibers in each layer.

In the framework of matrix calculations, this problem is presented in section 1.3.1, equations [1.17] and [1.24]. It is detailed in equations [1.26] to [1.30].

### 1.6.2. Components of stiffness and compliance after transformation

We often have to deal with the problem of rotation around an axis. Below are three tables that will be useful in Chapters 6 to 12 of this book.

If we compare Table 1.3 with Table 1.4, we see that components of new matrix $\{\mathrm{C}\}$ after transformation do not necessarily have the same coefficients. The reason is, if we refer to transformation matrices, that equations [1.24] and [1.25], $\left\{\mathrm{M}_{\sigma}\right\}$ and $\left\{\mathrm{M}_{\varepsilon}\right\}$ are not the same. We recall that this is due to the definition or technical shear strains in equation [1.11].

However, for the purposes of computation, in the fabrication of codes the following remarks permit the utilization of a unique computer code. Equation [1.53] points out a connection between stiffness and compliance.

If three rotations are effected around three principal axes of an orthotropic material, the problem is reduced to index permutation, a rotation around z axis, the inverse permutation being effected in the next operation.

Table 1.5. concerns elastic technical constants.

$$
\left\{\begin{array}{cc}
\mathrm{S}_{\mathrm{ij}}=\mathrm{C}_{\mathrm{ij}} & \mathrm{i}, \mathrm{j}=1,2,3  \tag{1.54}\\
\mathrm{~S}_{\mathrm{pp}}=4 \mathrm{C}_{\mathrm{pp}} & \mathrm{p}=4,5,6 \\
\mathrm{~S}_{\mathrm{ij}}^{\prime}=\mathrm{C}_{\mathrm{ij}}^{\prime} & \mathrm{i}, \mathrm{j}=1,2,3 \\
\mathrm{~S}_{\mathrm{pp}}^{\prime}=4 \mathrm{C}_{\mathrm{pp}}^{\prime} & \mathrm{p}=4,5,6 \\
\mathrm{~S}_{45}^{\prime}=4 \mathrm{C}_{45}^{\prime} & \\
\mathrm{S}_{\mathrm{i} 6}^{\prime}=2 \mathrm{C}_{\mathrm{i} 6}^{\prime} & \mathrm{i}=1,2,3
\end{array}\right\}
$$

1.6.3. Remarks on shear elastic moduli $G_{i i}(i j=23,31,12)$ and stiffness constants $C_{i i}($ with $i=4,5,6)$

Comparing Table 1.5 to Table 1.3, we notice that:

$$
\mathrm{G}_{23}^{\prime} \neq \mathrm{C}_{44}^{\prime}, \quad \mathrm{G}_{31}^{\prime} \neq \mathrm{C}_{55}^{\prime}, \quad \mathrm{G}_{12}^{\prime} \neq \mathrm{C}_{12}^{\prime}
$$

### 1.6.4. The practical consequence of a transformation of reference axes

This problem concerns only anisotropic materials. Compliance and stiffness tensors are of fourth order:

$$
\begin{equation*}
\mathrm{c}_{\mathrm{ijkl}}^{\prime}=\mathrm{P}_{\mathrm{pi} \mathrm{i}} \cdot \mathrm{P}_{\mathrm{qj}} \cdot \mathrm{P}_{\mathrm{rk}} \cdot \mathrm{P}_{\mathrm{sl},} \cdot \mathrm{c}_{\mathrm{pqrs}} \tag{1.55}
\end{equation*}
$$

$\mathrm{P}_{\alpha \beta}$ being direction cosine.
In Tables 1.3, 1.4 and 1.5 the consequence of the rank of those tensors is that the power of coefficients in each tensor component is 4 . This raises the problem of accuracy and errors in measurements of the new components. Any error in angle $\alpha$ has a strong influence on the evaluated components of the two matrices. In some circumstances, before fabrication of the sample, the angle $\alpha$ has to be optimized.

### 1.7. Invariants and their applications in the evaluation of elastic constants

In textbooks devoted to continuum mechanics, invariants are extensively used in the study of stress and strain tensors. By definition, invariants are scalars obtained by a combination of matrix (or tensor) elements that remain constant by transformation of the reference axes. For second-order tensors concerning stress and strain, the three invariants are the coefficients of characteristic equation:

$$
\begin{equation*}
\operatorname{det}([\sigma]-\lambda[I])=0 \tag{1.56}
\end{equation*}
$$

## Matrix of rigidity

$$
\begin{aligned}
& \left\{\mathrm{C}^{\prime}\right\}=\left\{\mathrm{M}_{\sigma}\right\}\{\mathrm{C}\}\left\{\mathrm{M}_{\sigma}\right\}^{\mathrm{t}} \\
& C^{\prime}{ }_{11}=C_{11} \cos ^{4} \alpha+2\left(C_{12}+2 C_{66}\right) \sin ^{2} \alpha \cos ^{2} \alpha+C_{22} \sin ^{4} \alpha \\
& C^{\prime}{ }_{12}=\left(C_{11}+C_{12}-4 C_{66}-2 C_{12}\right) \sin ^{2} \alpha \cos ^{2} \alpha+C_{12} \\
& \mathrm{C}^{\prime}{ }_{13}=\mathrm{C}_{13} \cos ^{2} \alpha+\mathrm{C}_{23} \sin ^{2} \alpha \\
& \mathrm{C}^{\prime}{ }_{14}=\mathrm{C}^{\prime}{ }_{15}=0 \\
& \mathrm{C}^{\prime}{ }_{16}=\left[\mathrm{C}_{22} \sin ^{2} \alpha-\mathrm{C}_{11} \cos ^{2} \alpha+\left(\mathrm{C}_{12}+2 \mathrm{C}_{66}\right)\left(\cos ^{2} \alpha-\sin ^{2} \alpha\right)\right] \sin \alpha \cos \alpha \\
& \mathrm{C}^{\prime}{ }_{22}=\mathrm{C}_{11} \sin ^{4} \alpha+2\left(\mathrm{C}_{12}+2 \mathrm{C}_{66}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{C}_{22} \cos ^{4} \alpha \\
& \mathrm{C}^{\prime}{ }_{23}=\mathrm{C}_{13} \sin ^{2} \alpha+\mathrm{C}_{23} \cos ^{2} \alpha \\
& \mathrm{C}^{\prime}{ }_{24}=\mathrm{C}^{\prime}{ }_{25}=0 \\
& \mathrm{C}^{\prime}{ }_{26}=\left[\mathrm{C}_{22} \cos ^{2} \alpha-\mathrm{C}_{11} \sin ^{2} \alpha-\left(\mathrm{C}_{12}+2 \mathrm{C}_{66}\right)\left(\cos ^{2} \alpha-\sin ^{2} \alpha\right)\right] \sin \alpha \cos \alpha \\
& C^{\prime}{ }_{33}=C_{33} \\
& \mathrm{C}^{\prime}{ }_{34}=\mathrm{C}^{\prime}{ }_{35}=0 \\
& \mathrm{C}^{\prime}{ }_{36}=\left(\mathrm{C}_{23}-\mathrm{C}_{13}\right) \sin \alpha \cos \alpha \\
& \mathrm{C}^{\prime}{ }_{44}=\mathrm{C}_{44} \cos ^{2} \alpha+\mathrm{C}_{55} \sin ^{2} \alpha \\
& \mathrm{C}_{45}^{\prime}=\left(\mathrm{C}_{44}-\mathrm{C}_{55}\right) \sin \alpha \cos \alpha \\
& \mathrm{C}^{\prime}{ }_{46}=0 \\
& \mathrm{C}^{\prime}{ }_{55}=\mathrm{C}_{44} \sin ^{2} \alpha+\mathrm{C}_{55} \cos ^{2} \alpha \\
& C^{\prime}{ }_{56}=0 \\
& C^{\prime}{ }_{66}=\left(C_{11}+C_{12}-2 C_{12}-4 C_{66}\right) \sin ^{2} \alpha \cos ^{2} \alpha+C_{66}
\end{aligned}
$$

Table 1.3. Rotation with an angle $\alpha$ around $z$ axis and its influence on stiffness matrix $\{C\}$ of an orthotropic material

## Compliance matrix

$\left\{\mathrm{S}^{\prime}\right\}=\left\{\mathrm{M}_{\varepsilon}\right\}\{\mathrm{S}\}\left\{\mathrm{M}_{\varepsilon}\right\}^{\mathrm{t}}$
$\mathrm{S}_{11}^{\prime}=\mathrm{S}_{11} \cos ^{4} \alpha+\left(\mathrm{S}_{66}+2 \mathrm{~S}_{12}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{S}_{22} \sin ^{4} \alpha$
$\mathrm{S}_{12}^{\prime}=\left(\mathrm{S}_{11}+\mathrm{S}_{22}-\mathrm{S}_{66}-2 \mathrm{~S}_{12}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{S}_{12}$
$\mathrm{S}_{13}^{\prime}=\mathrm{S}_{13} \cos ^{2} \alpha+\mathrm{S}_{23} \sin ^{2} \alpha$
$\mathrm{S}_{14}^{\prime}=\mathrm{S}_{15}^{\prime}=0$
$\mathrm{S}_{16}^{\prime}=2\left[\mathrm{~S}_{22} \sin ^{2} \alpha-\mathrm{S}_{11} \cos ^{2} \alpha+\left[\mathrm{S}_{12}+\frac{\mathrm{S}_{66}}{2}\right]\left(\cos ^{2} \alpha-\sin ^{2} \alpha\right)\right] \sin \alpha \cos \alpha$
$\mathrm{S}_{22}^{\prime}=\mathrm{S}_{11} \sin ^{4} \alpha+\left(\mathrm{S}_{66}+2 \mathrm{~S}_{12}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{S}_{22} \cos ^{4} \alpha$
$\mathrm{S}_{23}^{\prime}=\mathrm{S}_{13} \sin ^{2} \alpha+\mathrm{S}_{23} \cos ^{2} \alpha$
$\mathrm{S}_{12}^{\prime}=\mathrm{S}_{25}^{\prime}=0$
$\mathrm{S}_{26}^{\prime}=2\left[\mathrm{~S}_{22} \cos ^{2} \alpha-\mathrm{S}_{11} \sin ^{2} \alpha-\left[\mathrm{S}_{12}+\frac{\mathrm{S}_{66}}{2}\right]\left(\cos ^{2} \alpha-\sin ^{2} \alpha\right)\right] \sin \alpha \cos \alpha$
$\mathrm{S}_{33}^{\prime}=\mathrm{S}_{33}$
$\mathrm{S}_{34}^{\prime}=\mathrm{S}_{35}^{\prime}=0$
$\mathrm{S}_{36}^{\prime}=2\left(\mathrm{~S}_{23}-\mathrm{S}_{13}\right) \sin \alpha \cos \alpha$
$\mathrm{S}_{44}^{\prime}=\mathrm{S}_{44} \cos ^{2} \alpha+\mathrm{S}_{55} \sin ^{2} \alpha$
$\mathrm{S}_{45}^{\prime}=\left(\mathrm{S}_{44}-\mathrm{S}_{55}\right) \sin \alpha \cos \alpha$
$S_{46}^{\prime}=0$
$\mathrm{S}_{55}^{\prime}=\mathrm{S}_{44} \sin ^{2} \alpha+\mathrm{S}_{55} \cos ^{2} \alpha$
$\mathrm{S}_{56}^{\prime}=0$
$\mathrm{S}_{66}^{\prime}=4\left(\mathrm{~S}_{11}+\mathrm{S}_{22}-2 \mathrm{~S}_{12}-\mathrm{S}_{66}\right) \sin ^{2} \alpha \cos ^{2} \alpha+\mathrm{S}_{66}$
Table 1.4. Rotation with an angle $\alpha$ around $z$ axis and its influence on compliance matrix $\{S\}$ of an orthotropic material

## Technical elastic moduli

$\frac{1}{E_{1}^{\prime}}=S_{11}^{\prime}=\left(\frac{\cos ^{4} \alpha}{E_{1}}\right)+\frac{\sin ^{4} \alpha}{E_{2}}+\frac{\sin ^{2} \alpha \cos ^{2} \alpha}{G_{12}}-\frac{2 v_{12}}{E_{1}} \sin ^{2} \alpha \cos ^{2} \alpha$
$\frac{1}{E_{2}^{\prime}}=S_{22}^{\prime}=\frac{\sin ^{4} \alpha}{E_{1}}+\frac{\cos ^{4} \alpha}{E_{2}}+\frac{\sin ^{2} \alpha \cos ^{2} \alpha}{G_{12}}-\frac{2 v_{12}}{E_{1}} \sin ^{2} \alpha \cos ^{2} \alpha$
$E_{3}^{\prime}=E_{3}$
$-v_{12}^{\prime}=E_{1}^{\prime}\left[\left(\frac{1}{E_{1}}+\frac{1}{E_{2}}-\frac{1}{G_{12}}+\frac{2 v_{12}}{E_{1}}\right) \sin ^{2} \alpha \cos ^{2} \alpha-\frac{v_{12}}{E_{1}}\right]$
$v_{13}^{\prime}=\frac{E_{1}}{E_{3}}\left(v_{31} \cos ^{2} \alpha+v_{32} \sin ^{2} \alpha\right)$
$v_{23}^{\prime}=\frac{E_{2}^{\prime}}{E_{3}}\left(v_{31} \sin ^{2} \alpha+v_{32} \cos ^{2} \alpha\right)$
$\mathrm{G}_{23}^{\prime}=\frac{1}{\mathrm{~S}_{44}^{\prime}}=\left[\frac{\cos ^{2} \alpha}{\mathrm{G}_{23}}+\frac{\sin ^{2} \alpha}{\mathrm{G}_{13}}\right]^{-1}$
$\mathrm{G}_{13}^{\prime}=\frac{1}{\mathrm{~S}_{55}^{\prime}}=\left[\frac{\sin ^{2} \alpha}{\mathrm{G}_{23}}+\frac{\cos ^{2} \alpha}{\mathrm{G}_{13}}\right]^{-1}$
$\mathrm{G}_{12}^{\prime}=\frac{1}{\mathrm{~S}_{66}^{\prime}}=\frac{1}{4}\left[\begin{array}{c}\left(\frac{1}{\mathrm{E}_{1}}+\frac{1}{\mathrm{E}_{2}}+\frac{2 v_{12}}{\mathrm{E}_{1}}\right) \sin ^{2} \alpha \cos \alpha+ \\ \frac{1}{\mathrm{G}_{12}}\left(\frac{1}{4}-\sin ^{2} \alpha \cos ^{2} \alpha\right)\end{array}\right]^{-1}$

Table 1.5. Rotation with an angle $\alpha$ around $z$ axis and its incidence on technical elastic constants
[I] being the identity matrix:

$$
[\mathrm{I}]=\left[\begin{array}{lll}
1 & 0 & 0 \\
0 & 1 & 0 \\
0 & 0 & 1
\end{array}\right]
$$

For the stress matrix we have ${ }^{5}$ :

$$
\begin{aligned}
& \mathrm{I}(\sigma)=\frac{\sigma_{11}+\sigma_{22}+\sigma_{33}}{3} \text { linear invariant } \\
& \mathrm{II}(\sigma)=\frac{1}{2}\left(\sigma_{\mathrm{ij}} \sigma_{\mathrm{ji}}-\sigma_{\mathrm{ij}} \sigma_{\mathrm{ij}}\right) \quad \text { quadratic invariant } \\
& \mathrm{III}(\sigma)=\operatorname{det}[\sigma] \quad \text { cubic invariant (determinant) }
\end{aligned}
$$

In a plane stress state, the two first invariants are graphically represented by the Mohr circle [TSA 80]. This representation is convenient for the experimental evaluation of strains by strain gauges.

For fourth rank tensors, calculation of invariants is similar to that which is presented above. The number of invariants is higher. There are five invariants of the first order, two invariants of the second order, and one of the third order.

Details of the calculation can be found in [CHE 96, JON 75, LEK 60, TSA 80].

### 1.7.1. Elastic constants versus invariants

Table 1.6 collects the invariants of the three-species material, which when examined are orthotropic. It is easy to convert the expressions for another type of material (quasi-isotropic transverse, isotropic transverse or cubic ones).

[^5]Components of stiffness matrix $\{\mathrm{C}\}$ are expressed against the invariants as follows:

$$
\begin{align*}
& \mathrm{C}_{11}^{\prime}=\mathrm{U}_{1}+\mathrm{U}_{2} \cos 2 \alpha+\mathrm{U}_{3} \cos 4 \alpha \\
& \mathrm{C}_{12}^{\prime}=\mathrm{U}_{4}-\mathrm{U}_{3} \cos 4 \alpha \\
& \mathrm{C}_{13}^{\prime}=\mathrm{V}_{1}+\mathrm{V}_{2} \cos 2 \alpha \\
& \mathrm{C}_{16}^{\prime}=-\frac{\mathrm{U}_{2}}{2} \sin 2 \alpha-\mathrm{U}_{3} \sin 4 \alpha \\
& \mathrm{C}_{22}^{\prime}=\mathrm{U}_{1}-\mathrm{U}_{2} \cos 2 \alpha+\mathrm{U}_{3} \cos 4 \alpha \\
& \mathrm{C}_{23}^{\prime}=\mathrm{V}_{1}-\mathrm{V}_{2} \cos 2 \alpha  \tag{1.57}\\
& \mathrm{C}_{26}^{\prime}=-\frac{\mathrm{U}_{2}}{2} \sin 2 \alpha+\mathrm{U}_{3} \sin 4 \alpha \\
& \mathrm{C}_{36}^{\prime}=-\frac{\mathrm{V}_{2}}{2} \sin 2 \alpha \\
& \mathrm{C}_{44}^{\prime}=\mathrm{W}_{1}+\mathrm{W}_{2} \cos 2 \alpha \\
& \mathrm{C}_{45}^{\prime}=\mathrm{W}_{2} \sin 2 \alpha \\
& \mathrm{C}_{55}^{\prime}=\mathrm{W}_{1}-\mathrm{W}_{2} \cos 2 \alpha \\
& \mathrm{C}_{66}^{\prime}=\mathrm{U}_{5}-\mathrm{U}_{3} \cos 4 \alpha
\end{align*}
$$

with:

$$
\begin{aligned}
& \mathrm{U}_{1}=\frac{3 \mathrm{C}_{11}+3 \mathrm{C}_{22}+2 \mathrm{C}_{12}+4 \mathrm{C}_{66}}{8} \\
& \mathrm{U}_{2}=\frac{\mathrm{C}_{11}-\mathrm{C}_{22}}{2}
\end{aligned}
$$

$$
\begin{align*}
& \mathrm{U}_{3}=\frac{\mathrm{C}_{11}+\mathrm{C}_{22}-2 \mathrm{C}_{12}-4 \mathrm{C}_{66}}{8} \\
& \mathrm{U}_{4}=\frac{\mathrm{C}_{11}+\mathrm{C}_{22}+6 \mathrm{C}_{12}-4 \mathrm{C}_{66}}{8} \\
& \mathrm{U}_{5}=\frac{\mathrm{C}_{11}+\mathrm{C}_{22}-6 \mathrm{C}_{12}-4 \mathrm{C}_{66}}{8}  \tag{1.58}\\
& \mathrm{~V}_{1}=\frac{\mathrm{C}_{13}+\mathrm{C}_{23}}{2} \\
& \mathrm{~V}_{2}=\frac{\mathrm{C}_{13}-\mathrm{C}_{23}}{2} \\
& \mathrm{~W}_{1}=\frac{\mathrm{C}_{44}+\mathrm{C}_{55}}{2} \\
& \mathrm{~W}_{2}=\frac{\mathrm{C}_{44}-\mathrm{C}_{55}}{2}
\end{align*}
$$

The invariants presented in Table 1.6 are independent. By combination, other families of invariants can be obtained.
$\mathrm{U}_{1}, \mathrm{U}_{2}, \mathrm{U}_{3}$ and $\mathrm{U}_{4}$ in [1.58] can be considered to be a linear combination of invariants or power of invariants.

$$
\begin{align*}
& \frac{3 \mathrm{C}_{11}^{\prime}+3 \mathrm{C}_{22}^{\prime}+2 \mathrm{C}_{12}^{\prime}+4 \mathrm{C}_{66}^{\prime}}{8}=\frac{\mathrm{I}_{1}(\mathrm{C})+2 \mathrm{I}_{2}(\mathrm{C})}{8}=\mathrm{U}_{1} \\
& \frac{\mathrm{C}_{11}^{\prime}+\mathrm{C}_{22}^{\prime}+6 \mathrm{C}_{12}^{\prime}-4 \mathrm{C}_{66}^{\prime}}{8}=\frac{3 \mathrm{I}_{1}(\mathrm{C})-2 \mathrm{I}_{2}(\mathrm{C})}{8}=\mathrm{U}_{4}  \tag{1.59}\\
& \frac{\mathrm{C}_{11}^{\prime}+\mathrm{C}_{22}^{\prime}-2 \mathrm{C}_{12}^{\prime}+4 \mathrm{C}_{66}^{\prime}}{8}=\frac{2 \mathrm{I}_{1}(\mathrm{C})-2 \mathrm{I}_{2}(\mathrm{C})}{8}=\mathrm{U}_{5}=\frac{\mathrm{U}_{1}-\mathrm{U}_{4}}{2} \\
& \mathrm{C}_{11}^{\prime} \mathrm{C}_{22}^{\prime}+2 \mathrm{C}_{66}^{\prime}\left(\mathrm{C}_{11}^{\prime}+\mathrm{C}_{22}^{\prime}\right)-\mathrm{C}_{12}^{\prime 2}-2 \mathrm{C}_{16}^{\prime 2}-2 \mathrm{C}_{26}^{\prime 2}=\mathrm{U}_{1}^{2}-\mathrm{U}_{2}^{2}-\mathrm{U}_{4}^{2}-4 \mathrm{U}_{3}^{2}
\end{align*}
$$

### 1.7.2. Practical utilization of invariants in the evaluation of elastic constants

Measurements of elastic constants are subject to errors of different kinds:

- error of angle $\alpha$ due to the fabrication of a sample's dimension error;
- dimension errors of the samples;
- errors in measurement during static or dynamics tests.

Evaluation of elastic constants cannot be reduced to a restricted number of measurements. We have to deal with an optimization problem with $\alpha$ as a parameter.

The first stage concerns evaluation of elastic constants ( $\mathrm{C}_{\mathrm{ij}}$ or $\left.\mathrm{S}_{\mathrm{ij}}\right)$. Each set of experimental results corresponds to an angle $\alpha$ in equations [1.57] to [1.58].

In the second stage, the calculation of invariants in Table 1.6 is carried out. Optimization of invariants constitutes the third step. From optimized invariants, elastic constants are calculated from [1.57].

### 1.8. Plane elasticity

In many mechanical structures, plate and/or shell elements are used. In such elements, the thickness is small compared to other dimensions. For plates, the number of stress and strain components is reduced to three.

In Figure 1.7, axis 3 is directed through the thickness.

### 1.8.1. Expression of plane stress stiffness versus compliance matrix

Components $\mathrm{S}_{\mathrm{ij}}$ :

$$
\{\sigma\}^{\mathrm{T}}=\left(\begin{array}{llllll}
\sigma_{11} & \sigma_{22} & 0 & 0 & 0 & \sigma_{12} \tag{1.60}
\end{array}\right)
$$

is the plane stress vector applied in plane (1,2), then for orthotropic material:

$$
\{\varepsilon\}^{\mathrm{T}}=\left(\begin{array}{llllll}
\varepsilon_{11} & \varepsilon_{22} & \varepsilon_{33} & 0 & 0 & 2 \varepsilon_{12}
\end{array}\right)
$$


[^0]:    1 Rheology designates the science which studies the flow (Greek radical Rheos) of solid or liquid materials.

[^1]:    2 Recently in electrical engineering, as well as in mechanical engineering, attention has focused on distributed models in a ladder using linear elementary models (springs and dashpots) or fractional derivatives which constitute an elegant method to characterize materials in a large frequency range with minimum parameters.
    3 Using variational principles and integrating by parts, we directly obtain equations of motion and natural boundary conditions as well.

[^2]:    $1\{\sigma\}=\left\{\sigma_{11}, \sigma_{22}, \sigma_{33}, \sigma_{23}, \sigma_{31}, \sigma_{12}\right\}^{\mathrm{T}}$ column matrix notation.

[^3]:    2 Attempt to transform a tension test into a compression test with normal stress applied to lateral boundaries (so as to prevent buckling) may give rise to false measurement of $\mathrm{E}_{1}$.

[^4]:    4 Another classification exists in crystallography using another vocabulary.

[^5]:    5 Developing II ( $\sigma$ ), III ( $\sigma$ ) we obtain:
    II $(\sigma)=\sigma_{11} \sigma_{22}+\sigma_{22} \sigma_{33}+\sigma_{33} \sigma_{11}-\sigma_{13}^{2}-\sigma_{21}^{2}-\sigma_{32}^{2}$
    III $(\sigma)=\sigma_{11} \sigma_{22} \sigma_{33}+2 \sigma_{12} \sigma_{13} \sigma_{23}-\sigma_{22} \sigma_{13}^{2}-\sigma_{33} \sigma_{12}^{2}-\sigma_{11} \sigma_{23}^{2}$

